# Statistical M echanics of $N$ onuniform $M$ agnetization $R$ eversal 

$H$ ans $B$ en jam in B raun
D epartm ent of Physics, U niversity of C alifornia San D iego, La Jolla CA 92093-0319
(M ay 9, 1994)


#### Abstract

T herm ally activated $m$ agnetization reversalin elongated particles is studied $w$ ithin a m odelthat allow sfor spatially nonuniform $m$ agnetization con gurations along the particle. A $n$ extemal eld antiparallel to the existing $m$ agnetization is show $n$ to give rise to an energy barrier which represents a spatially localized deviation from the in itial uniform m agnetization con guration. For su ciently elongated particles therm al uctuations thus substantially low er the coercivity com pared to the previous theories by N eel and $B$ row n which assum e a spatially uniform m agnetization. The magnetization reversal rate is calculated using a functionalFokker-P lanck description of the stochastic $m$ agnetization dynam ics. A nalytical results are obtained in the lim its of sm all elds and elds close to the anisotropy eld. In the form er case the hard-axis anisotropy becom es e ectively strong and the $m$ agnetization reversal rate is show $n$ to reduce to the nucleation rate of kink-antikink pairs in the overdam ped sine-G ordon m odel. The present theory therefore includes the nucleation theory of the double sine-G ordon chain as a special case.


PACS num bers: 05.40 . $+j, 75.10 \mathrm{Hk}, 75.60 \mathrm{Ch}, 75.60 \mathrm{E} j, 75.60 \mathrm{Jp}, 85.70 \mathrm{Li}, 87.40 .+\mathrm{w}, 9125 \mathrm{Ng}$

## I. IN T R O D U C T IO N

The $m$ agnetization in a uniform ly m agnetized sam ple is usually stabilized by an easy-axis anisotropy of crystalline or dem agnetizing origin. To reach a state of zero net $m$ agnetization one has to apply an extemal eld in the reversed direction, the so called coercive eld. In $m$ acroscopic sam ples of high purity such as Y ttrium Iron $G$ amet ( $Y$ IG ) ${ }^{1}$, this eld can be less than $10{ }^{2} \mathrm{Oe}$. This low coercivity is com $m$ only attributed to the existence of residual dom ains of reverse $m$ agnetization in the original uniform ly m agnetized state. T he m easured coercivity is then associated $w$ ith the depinning and $m$ otion of the corresponding dom ain walls.

This situation is strikingly di erent for $m$ icroscopic single-dom ain particles where no such residual dom ains exist. The coercivity can reach values ofm ore than 1000 $O$ e since the state of reversed $m$ agnetization has rst to be nucleated. C onsequently such particles exhibit an extrem ely high long-term stability of the $m$ agnetization. $T$ his fact renders them suitable for inform ation storage in recording $m$ edia and as constituents of rocks they preserve the value of the localm agnetic eld as the tem perature has dropped below the blocking tem perature of the particle. W ith decreasing sam ple size, how ever, the e ect of therm al uctuations becom es increasingly im portant. For particle sizes of a few nanom eters and at room tem perature the $m$ agnetization uctuates random ly over the anisotropy barrier and a supenparam agnetic state results w ith vanishing average m agnetic m om ent.

This paper concentrates on particles whose size is above the supenparam agnetic lim it but which are still sm all enough that the coercivity is a ected by therm al uctuations. The only ab-initio theory has been developed by $N$ eel and $B$ row $n^{3}$ and it is based on the assum ption that the $m$ agnetization distribution is uniform throughout the sam ple. C onsequently the energy bar-
rier is proportional to the volum e and the A rhenius factor leads to an exponential suppression of them al effects with the particle volume. This picture is indeed adequate for $s m$ all particles of approxim ately spherical shape. How ever, for su ciently elongated particles a m agnetization reversal via a rigid rotation of the m agnetization becom es energetically unfavorable. It will be $m$ ore advantageous to form a spatially localized excursion from the $m$ etastable state since the additional cost of exchange energy due to the spatial nonuniform ity is by far outw eighed by the gain of anisotropy energy by keeping the deviation localized.

It is the purpose of this paper to form ulate an ab initio theory of this e ect and to show that for su ciently elongated particles a spatially nonuniform barrier yields a much lower coercivity than previous theories. A short account of the results of the present paper has already been given elsew herd. W e shall start from a classical one-dim ensional model energy density which takes into account the exchange interaction betw een the $m$ agnetic m om ents along the particle. In addition, the energy density contains hard- and easy axis anisotropies as well as the coupling to an extemal eld. The anisotropies $m$ ay contain contributions ofboth, shape and crystalline anisotropies. T he barrier energy is then show $n$ to be independent of the hard-axis anisotropy, and it is proportional to the dom ain wall energy and the sam ple cross sectional area. C onsequently, the barrier energy is independent of the particle length for su ciently elongated particles.

In orderto inducem agnetization reversal, therm al uctuations have to form a \nucleus" of critical size w ith the property that sm aller deform ations fall back to the $m$ etastable state whereas larger deform ations grow with energy gain until the $m$ agnetization is reversed. Therefore the nucleus represents an unstable structure with exactly one unstable $m$ ode. A $n$ analytical expression for
this structure has been obtainedtll and the spin wave excitations of the nucleus have been investigated in a previous papert (henceforth referred to as I). For external elds close to the anisotropy eld which renders an individual $m$ agnetic $m$ om ent unstable, the nucleus represents only a sm alldeviation from the $m$ etastable state. Forsm all elds, the nucleus consists oftw o w ellseparated dom ain walls enclosing an already reversed dom ain.
$T$ he present approach relies on $m$ ethods that have been used in the description of the dynam ics of rst order phase transitions. This $m$ ethod has been applied for the description of the depfyy of a supercurrent ${ }^{3}$ in a thin $w$ ire or the propagation $9 \in 10$ ofdislocations. In contrast to these applications we consider here the regim e ofm oderate dam ping since dam ping in $m$ agnetic system $s$ is very sm all. The rate is shown to be the product of a pref actor depending on the extemal eld and tem perature $T$, and the A rhenius factor expf $A F_{5}=k_{B} T g$ which involves the barrier energy $A E_{s} w$ th $A$ the sam ple cross sectional area ( $k_{B}$ is the Boltzm ann constant).

For the evaluation of the prefactor we shallem ploy tw o di erent approaches. O ne is the Jacobim ethod which relies on the explicit know ledge of a zero-energy (G oldstone) m ode. Therefore it can only be applied for easyplane uctuations but it cannot be used for out of easyplane excitations due to the existence of a $m$ ass gap. The second $m$ ethod $m$ akes use of the scattering phase shifts of spin waves around the nucleus. This latter approach reveals som e considerable subtleties w hich do not seem to have been noted previoushy. F irst, for even-parity w avefunctions the 1D version 11 of Levinson's theorem alters the usual expression for the density of states. Second, the number of bound states of the uctuation operators is not conserved under $s m$ all and large nucleus approxim ations. This fact raises doubts about the com m only em ployed approach of perform ing functional integrals of the free energy after already having perform ed the lim its of sm all or large nuclei. By a careful investigation it is shown that these two subtleties conspire in such a way that this interchange of lim its is indeed legitim ate.
$T$ here are only sparse treatm ents of $m$ agnetization reversal in the literature. H owever, this eld is closely related to $m$ acroscopic quantum tunneling of the (sublattioe-) $m$ agnetization in sm all (anti-) ferrom agnetic grains, a subject that has attracted much interest recently. It thus appears to be usefulto relate som e im portant papers that contributed to the developm ent of these elds.
E arly work po nucleation theory culm inated in the celebrated paper ${ }^{13}$ by K ram ers who calculated the escape rate due to therm al activation out of a $m$ etastable state in the lim its of low as well as moderate to large friction. He showed that the rate is given by a prefactor tim es the A rmenius term. D espite the fact that his w ork was restricted to one degree of freedom, his m ethod of the evaluation of the prefactor tumed out to be so pow erfiul that its spirit still underlies $m$ uch $m$ ore com plex applications. A $n$ extension to an arbitrary num ber ofde-
grees of freedom $s$ in the large friction lim 苗was due to $B$ rinkm an, Landauer-Sw anson and Lange ${ }^{14}$. The case ofm oderate friction has been considered by Langet who also pointed out that the nucleation rate $m$ ay be interpreted as the analytic continuation of the partition function. T his idea is closely related to the subsequently developed instanton concept 15 in Euclidean quantum eld theories. K ram ers's theory and its extensions have recently been review ed by $H$ anggi, Talkner and B orkoved ${ }^{16}$.
$T$ he rst application of $K$ ram ers's theory to $m$ agnetic system shasbeen $m$ ade by $B$ row $n^{3}$ who investigated ther$m$ ally activated uniform $m$ agnetization reversal in $s m$ all ferrom agnetic particles to explain superparam agnetism. He set up the Fokker-P lanck equation for the stochastic dynam ics of the $m$ appetization and thus related $N$ eel's earlier consideration $\$ 3$ on reversal rates $w$ ith the general fram ew ork of statisticalm echanics. For axial sym $m$ etry of the anisotropy he obtained nucleation rates from the low est nonzero eigenvalue of the Fokker $P$ lanck equation in the lim it of low barriers. For a high barrier he used K ram ers's procedure to evaluate the rate constant. Later the low est positive eigenvalue was investigated num erically for all interm ediate values between low and large barriers by A haron 17 . E isenstein and A haron 18 investigated the com petition of the uniform $m$ ode and the nonuniform curling $m$ ode as possible candidates of critical nuclei for di erent particle radii. H ow ever, the nucleation rates via thenonuniform $m$ ode were calculated using B rown's theory for spatially uniform nucleation.

Subsequently the issue ofm agnetization reversal rates was not addressed for $m$ any years. A renew al of interest then arose from a quantum $m$ echanicalpoint of view. $B$ ased on path integra 10 and W KB20 techniques, rst investigations show ed that a single spin in an anisotropic eld behaves sim ilar to a particle with inertia and tunnels betw een di erent anisotropy $m$ inim $a$. It has then been suggested 21 that in sm all ferrom agnetic particles m acroscopic quantum tunneling $m$ ight occur. T he e ect of dissipation due to $m$ agnptpelastic coupling has been discussed byG arg and K im 22. In the context of recent experim ent 23 these apprpaches have been reexam ined and it has been predicted ${ }^{24}$ that quantum tunneling is suppressed for half integer spins as a consequence of a previously neglected $W$ ess-Zum ino term in the quantum spin action and the destructive interference of instanton and antinstanton paths.

W hile all these approaches dealt w ith tunneling via spatially uniform structures, tunneling via spatially nonuniform (bubble) structures in two dim ensions was investigated in the lim 苗 of extemalm agnetic elds close to the anisotropy eld 25 and for very sm all elds in the thin $w$ all approxim ation 26 . In the latter case the nucleating structure is a large cylindrical dom ain of reversed m agnetization delim ited by a Bloch wall. Various aspects of quantum tunneling w ith em phasis on tunneling of $B$ loch walls have recently been review ed by Stam $p$, C hudnovsky and B arbarazt.

Surprisingly, the conceptually much sim pler classical
problem of therm al nucleation rem ained untouched until recently. K lik and $G$ unther ${ }^{28}$ calculated the nucleation rate for nucleation via uniform structures for cubic sym $m$ etry. In contrast to earlier investigations they also calculated nucleation rates for a w eakly dam ped system. $N$ uclei of curling sym $m$ etry in an in nite cylindel ${ }^{29}$ and a nucleation center of spherical sym $m$ etry ${ }^{31}$ have been investigated recently.

From this review, there em erges clearly the need of an $a b$ initio theory for $m$ agnetization reversal rates via spatially nonuniform structures. The present work is organized as follow s:

In section II som e results of paper I are review ed which are relevant to the present work. In section III a functional Fokker $-P$ lanck equation is constructed which describes the stochastic $m$ agnetization dynam ics near the nucleus and the corresponding nucleation rate is derived. It is shown that the result has the sam e general structure as that of $R$ ef. $]_{\text {(b) }}$. The prefactor separates into a term describing the dynam ical decay of the nucleus and in a term arising from the $G$ aussian uctuations around the nucleus. The unstable mode enters in such a way as if it represented a stable mode. The details of the calculations are presented in an appendix. T he explicit evaluation of the prefactors in various lim its is then the sub ject of the rem aining sections. In section IV we evaluate the statistical part of the prefactor analytically in the lim it ofsm all and large nuclei as well as for large and sm all values of the hard-axis anisotropy. For sm all nuclei and if the hard-axis anisotropy is $m$ uch larger than the easy-axis anisotropy, the out of easy-plane uctuations do not contribute at all. In section $V$ the nucleation rate is evaluated in the overdam ped lim it. The rate in the $m$ oderately dam ped regim $e$ and the decay frequency of the nucleus are investigated in section V I. In section V II the results of the previous sections are used to calculate the creation rate ofkink-antikink pairs in the double sineG ordon system. It is show n that this rate reproduces the m agnetization reversal rate in the lim it of large hardaxis anisotropy or extemal elds close to the (easy-axis) anisotropy eld. In section V III experim ental im plications are discussed. For a particle of 100A diam eter and an aspect ratio $15: 1$, the present theory is show $n$ to yield a coercivity reduction from the anisotropy eld that is tw ioe as large as that of the $N$ eelB row $n$ theory. Finally the applicability range of the present theory is discussed since it is know $n$ that in the underdam ped lim it the rate is govemed by a di usion in energy rather than in conguration space.

## II. M ODEL, NUCLEUSAND FLUCTUATIONS

In this section we present the m odel and review som e im portant results of paper I. The ferrom agnet is described $w$ thin a classicalcontinuum $m$ odel, the $m$ agnetization being represented by a vector $M$ of constant $m$ ag-
nitude $\mathrm{M}_{0}$. We focus on an e ectively one-dim ensional situation where the $m$ agnetization only depends on one coordinate, i.e. $M=M(x ; t)$. The energy per unit area is given by

$$
\begin{align*}
E=Z_{L=2} d x & \frac{A}{M_{0}^{2}}\left(@_{x} M_{x}\right)^{2}+\left(@_{x} M_{y}\right)^{2}+\left(@_{x} M_{z}\right)^{2} \\
& \frac{K_{e}}{M_{0}^{2}} M_{x}^{2}+\frac{K_{h}}{M_{0}^{2}} M_{z}^{2} \quad H_{e x t} M_{x} ; \tag{2.1}
\end{align*}
$$

where $\varrho_{x} \quad @=@ x$ and $L$ is the nite sam ple length in $x-$ direction. U lim ately, we shall be interested in the lim it L! 1 . The rst term in 2.1) is the classical countenpart of exchange energy and $A$ is an exchange constant. The second term de nes an easy-axis along the $x$-direction. The third term is a hard-axis anisotropy which favors the $m$ agnetization to lie in the $x y-p l a n e$. $K_{e}>0$ and $K_{h}>0$ are easy- and hard-axis anisotropy constants respectively. T he degeneracy betw een the two anisotropy $m$ inim a along the $x$-axis is lifted by an extemalm agnetic eld $H$ ext along the positive $x$-axis. The energy 2.1) describesm agnetization gon gurations in an elongated particle ofdiam eter sm allen ${ }^{32}$ por com parable to the $m$ inim al length scale in the system $A=K_{m a x}$, where $\mathrm{K}_{\mathrm{m} \text { ax }}$ is the larger of the an isotropy constants $\mathrm{K}_{\mathrm{e}} ; \mathrm{K}_{\mathrm{h}}$.
$N$ ote that the energy 2.1) can be used to describe three distinct anisotropy con gurations in elongated particles. The rst, $m$ ost com $m$ on case is an easy-axis along the particle axis which $m$ ay be caused by both dem agnetizing (shape) and crystalline anisotropy (cf. Fig 1 a). E .g. for an in nite cylinder $w$ ith an easy-axis along the sample one has $K_{e}=M_{0}^{2}+K_{e ; c r y s t}$ where the rst term is due to the shape anisotropy and the second term due to crystalline anisotropy. T he hard-axis anisotropy $m$ ay arise either from an additional crystalline easy-ax is that is $m$ isaligned $w$ ith the particle axis or from an elliptic sam ple cross section. The second case is an elongated particle of a $m$ aterial of high crystalline an isotropy ( $\mathrm{K}_{\text {e;cryst }}>2 \mathrm{M}{ }_{0}^{2}$ ) w ith both easy-and hard-axis perpendicular to the long-axis of the sam ple (cf. Fig 1b). The third case refers to a thin slab with an easy-axis anisotropy in the lm plane (cf. Fig in c).

In the follow ing we focus on a situation as in F ig. 1a). $T$ he results for con gurations show $n$ in $F$ igs. 1 b), $c$ ) are sim ply obtained by substituting $y$ and $z$ for the $x-$ dependence of the $m$ agnetization. The com ponents in intemal (spin) space rem ain unchanged and the spherical coordinates are alw ays de ned in the sam e way w ith respect to the coordinate axes.

The dissipative dynam ics of the $m$ agnetization is assum ed to obey the Landau-Lifshitz-G ilbert equations (see e.g. Ref. 33) :

$$
\begin{equation*}
\varrho_{\mathrm{t}} \mathrm{M}=\quad \mathrm{M} \quad \mathrm{H}_{\mathrm{b}}+\frac{\mathrm{M}_{0}}{M} \quad Q_{\mathrm{M}}: \tag{22}
\end{equation*}
$$

where > 0 denotes the gyrom agnetic ratio, > 0 is the dim ensionless dam ping constant and $\varrho_{t}=@=@ t$.

The rst term on the rh.s. of (2.2) describes the precession of the $m$ agnetization in the ective $m$ agnetic eld $H_{e}=E=M$ ( = M denotes a functional derivative). $T$ he second term in (2.2) is a viscous dam ping term and accounts for the relaxation of the $m$ agnetization into the direction of the e ectivem agnetic eld. Thisterm isphenom enological in nature. It describes dam ping processes $w$ hich conserve the $m$ agnitude of the $m$ agnetization at every space point. It is convenient to rew rite 2.2) as follow s

$$
\begin{equation*}
\left.\left(1+{ }^{2}\right) Q_{t} M \quad M \quad H_{e} \quad \overline{M_{0}} M \quad M \quad H_{e}\right]: \tag{2.3}
\end{equation*}
$$

This equation is obtained by evaluating the cross product of M w ith 2.2). Eq. (2.3) is sim ilar to the dam ping term originally proposed by Landau and Lifshitz. H ow ever, Eq. 2.3) contains the dam ping param eter such that the $m$ otion is slow ed dow $n$ for large while the original equation of Landau-屯ifshitz exhibits an unphysical acceleration of the $m$ otion for large dam ping param eters.

Since (2.3) conserves the $m$ agnitude of the $m$ agnetization it is appropriate to introduce spherical coordinates according to $\mathrm{M}=\mathrm{M}_{0}=(\sin \cos , \sin \sin ; \cos )$. We use dim ensionless units de ned by

$$
\begin{align*}
& {[\mathrm{x}]=[\mathrm{y}]=[\mathrm{z}]=\frac{\mathrm{r}}{\frac{\mathrm{~A}}{\mathrm{~K}_{\mathrm{e}}} ;}} \\
& \mathbb{E}]=\left(1+{ }^{2}\right) \frac{\mathrm{M}_{0}}{2 \mathrm{~K}_{\mathrm{e}}} ; \\
& \mathbb{E}]=2^{\mathrm{p}} \overline{\mathrm{AK}_{\mathrm{e}}}: \tag{2.4}
\end{align*}
$$

$\mathrm{P} \overline{\mathrm{A}=\mathrm{K}_{\mathrm{e}}}$ is the B loch wallw idth, $2 \quad \mathrm{~K}_{\mathrm{e}}=\mathrm{M}_{0}$ is the precession frequency in the anisotropy eld. To sim plify notation, an addifionalfactor $1+{ }^{2}$ hasbeen absorbed in the tim e scale. $2 \mathrm{P} \overline{\mathrm{AK}_{\mathrm{e}}}$ is half the energy of a static $\quad \mathrm{Bloch}$ wall. In dim ensionless units and spherical coordinates the energy per area 2.1) takes the follow ing form

$$
\begin{aligned}
& \mathrm{E}=\mathrm{Z}_{\mathrm{L}=2}^{\mathrm{Z}=2} \mathrm{dx} \frac{1}{2}\left(@_{\mathrm{X}}\right)^{2}+\sin ^{2} \quad\left(\mathbb{Q}_{\mathrm{X}}\right)^{2} \\
& \frac{1}{2}\left[\sin ^{2} \cos ^{2} \quad 1\right]+\frac{Q^{1}}{2} \cos ^{2} \quad h\left[\begin{array}{ll}
\sin & \cos +1] ;
\end{array}\right.
\end{aligned}
$$

In 2.5), the dim ensionless anisotropy ratio

$$
\begin{equation*}
Q=\frac{\mathrm{K}_{\mathrm{e}}}{\mathrm{~K}_{\mathrm{h}}} ; \tag{2.6}
\end{equation*}
$$

and the reduced extemal eld

$$
\begin{equation*}
\mathrm{h}=\frac{\mathrm{H}_{\mathrm{ext}} \mathrm{M}_{0}}{2 \mathrm{~K}_{\mathrm{e}}} \text {; } \tag{2.7}
\end{equation*}
$$

have been introduced. U sing (2.4) and spherical coordinates, the equations of $m$ otion (2.3) take the follow ing form (see also the appendix of Ref. (33)

$$
\begin{align*}
\sin \quad & =\frac{E}{\sin }-\frac{E}{-} \\
@_{t} & =\frac{1}{\sin }-\frac{E}{-} \tag{2.8}
\end{align*}
$$

The rst term son the rh.s. describe the precession in the e ective $m$ agnetic eld, whereas the term sproportional to are dam ping term $s$.

Spatially uniform static solutions of 2.3) lie in the easy plane and are given by $(0 ; 0)=(0 ;=2)$ and $(\mathrm{m} ; \mathrm{m})=(;=2)$, the latter being stable only for $h<1$. The state ( 0 ; o) is completely aligned with the extemal eld and thus represents the state of low est energy. The con guration ( $\mathrm{m} ; \mathrm{m}$ ) is oriented antiparallel to the extemal eld and its energy per volum e exceeds that of the ground state ( 0 ; 0 ) by 2 h . Therefore $(\mathrm{m} ; \mathrm{m})$ is a m etastable state for $\mathrm{h}<1$.
At nite tem peratures, them agnetization exhibits uctuations around the $m$ etastable state until it eventually overcom es a barrier form agnetization reversal. For large sam ple length $L$, a m agnetization reversalvia a uniform rotation of the $m$ agnetization is highly unlikely since it would require an energy proportional to L. Instead, the system will establish m agnetization reversal by form ing a spatially localized deviation from the $m$ etastable state. There is a well de ned \nucleus" of critical size w ith the property that deform ations of sm aller size fall back to the $m$ etastable state, whereas larger deform ations grow w ith energy gain until the whole system is in the ground state parallel to the extemal eld. In paper I it has been show $n$ that the $m$ agnetization con guration (cf. ( $(, 3.9)$ ) de ned by

$$
\begin{equation*}
\tan \frac{s}{2}=\frac{\cosh \frac{x x_{0}}{\sinh R} ; \quad s==2 ; ~}{s} ; \quad= \tag{2.9}
\end{equation*}
$$

w ith

$$
\begin{equation*}
\operatorname{sech}^{2} R=h ; \quad=\operatorname{coth} R ; \tag{2.10}
\end{equation*}
$$

exhibits exactly one unstable $m$ ode and thus represents such a nucleus of critical size. Eq. 2.9) is in principle only valid for a sam ple of in nite length $L$ but it is an excellepht approxim ation for a sam ple of nite length
(2. $\mathrm{G} \mathrm{L} \mathrm{L} 2 \overline{\mathrm{~A}=\mathrm{K}_{\mathrm{e}}}$. For typographical sim plicity the subscript s of and $R$ hasbeen dropped in contrast to paper I. $x_{0}$ denotes the arbitrary position of the nucleus along the particle. $T$ his degeneracy $w$ ith respect to translations gives rise to zero energy ( G oldstone) m ode. In the follow ing we shall put $x_{0}=0$. The structure 2.9) can also be view ed as a superposition of two $B$ loch walls centered at $\mathrm{x}=\mathrm{R}=+\times \mathrm{w}$ ith opposite relative sense of tw ist. For R sm all, 2.9) represents only a sm all deviation from the $m$ etastable state, $w$ hereas for large $R$ it represents a large dom ain of size $2 R$ delim ited by an untw isted pair of dom ain walls (cf. Fig. (2). In the follow ing we shall restrict ourselves to ${ }_{s}^{+}$only and we shall drop the superscript. The existence of two equivalent saddle points
w ill result in a factor oftwo in the nalexpression of the nucleation rate.

O ut ofeasy-plane uctuationsp and azim uthal uctuations' around $s$ are introduced as follow s

$$
\begin{align*}
& (x ; t)=s(x)+{ }^{\prime}(x ; t) ; \\
& (x ; t)=2 \quad p(x ; t): \tag{2.11}
\end{align*}
$$

Inserting 2.11) into the energy 2.5) we obtain up to $2^{\text {nd }}$ order in' and $p$
$E_{S}^{(2)}=E_{S}+\frac{1}{2}{ }_{L=2}^{Z} d x^{\prime} H^{s^{\prime}},+\frac{1}{2}{ }_{L=2}^{Z=2} d x p H^{s p} p$;
where

$$
\begin{align*}
& H^{s^{\prime}}=\frac{d^{2}}{d x^{2}}+{ }^{2} V \quad \stackrel{x}{-} ; \mathrm{R} ;  \tag{2.13}\\
& H^{\mathrm{sp}}=\frac{\mathrm{d}^{2}}{\mathrm{dx}^{2}}+{ }^{2} \mathrm{~V}_{+} \quad \underset{-}{\mathrm{x}} ; \mathrm{R}+\mathrm{Q}^{1}: \tag{2.14}
\end{align*}
$$

T he energy per unit area of the nucleus 2.9) is given by

$$
\begin{equation*}
\mathrm{E}_{\mathrm{s}}=4 \tanh \mathrm{R} \quad 4 \mathrm{R} \operatorname{sech}^{2} \mathrm{R}: \tag{2.15}
\end{equation*}
$$

The characteristic width is given by (2.10), and the potentials V can be inferred from ( $1,4.13$ )

$$
\begin{align*}
V(; R)= & 1 \quad 2 \operatorname{sech}^{2}(+R) \quad 2 \operatorname{sech}^{2}(\quad R) \\
& 2 \operatorname{sech}(+R) \operatorname{sech}(\quad R): \tag{2.16}
\end{align*}
$$

T he eigenvalue problem s of (2.13) and (2.14) are w ritten as follow s

$$
\begin{align*}
H^{s^{\prime}} s^{\prime}(x ; R) & =E^{s^{\prime}}(\mathbb{R})^{s^{\prime}}(x ; R) ;  \tag{2.17}\\
H^{s p} s p(x ; R) & =E^{s p}(\mathbb{R})^{s p}(x ; R) ; \tag{2.18}
\end{align*}
$$

where denotesboth, bound states and scattering states. From I, two solutions of the eigenvalue problem s 2.17) are known: the ground state of $\mathrm{H}^{\mathrm{sp}}$

$$
\begin{equation*}
\operatorname{sp}_{0} / 1^{n} \operatorname{sech}\left(\frac{x}{-}+R\right)+\operatorname{sech}\left(\frac{x}{-} \quad R\right)^{0} ; E_{0}^{s p}=Q^{1} \text {; } \tag{2.19}
\end{equation*}
$$

and the rst excited state of $\mathrm{H}^{\mathrm{s}^{\prime}}$

$$
\begin{equation*}
\left.\stackrel{s}{\prime}_{1}^{\prime} / 1_{1}^{n} \operatorname{sech}(-\mathrm{x}+\mathrm{R}) \quad \operatorname{sech} \stackrel{\mathrm{x}}{\leftarrow} \quad \mathrm{R}\right) ; \mathrm{E}_{1}^{\mathrm{s}^{\prime}}=0 \text { : } \tag{2,20}
\end{equation*}
$$

Since $\begin{aligned} & s^{\prime} \\ & 1\end{aligned}$ is antisym $m$ etric, there is exactly one unstable m ode of negative energy in ' while all uctuations in p direction have positive energy since $Q{ }^{1}>0$. Therefore the untw isted dom ain wallpair represents a saddle point of the energy w ith exactly one unstable direction.
$T$ he operators characterizing the $m$ odes around the m etastable state ( $\mathrm{m} ; \mathrm{m}$ ) are obtained in an analogous way. Inserting

$$
\begin{align*}
& (x ; t)=+{ }^{\prime}(x ; t) ; \\
& (x ; t)=2 \quad p(x ; t) ;
\end{align*}
$$

into 2.5) we have

$$
\begin{equation*}
E_{m}^{(2)}=\frac{1}{2}_{L=2}^{Z} d x^{L=2} H^{m^{\prime}},+\frac{1}{2}_{L=2}^{Z}{ }_{L=2} d x p H^{m p} p ; \tag{2.22}
\end{equation*}
$$

where the operators

$$
\begin{align*}
& \mathrm{H}^{\mathrm{m}^{\prime}}=\frac{\mathrm{d}^{2}}{\mathrm{dx}^{2}}+{ }^{2} ; \\
& \mathrm{H}^{\mathrm{mp}}=\frac{\mathrm{d}^{2}}{\mathrm{dx}^{2}}+{ }^{2}+\mathrm{Q}^{1} ; \tag{223}
\end{align*}
$$

re ect the spatial uniform 訨y of the $m$ etastable state. In order to calculate nucleation rates by them alactivation, we have to exam ine the stochastic dynam ics around the nucleus.

## III. STOCHASTIC MOTION AND NUCLEATION RATE

The dissipative dynam ics of the $m$ agnetization is govemed by the equations ofm otion 2.8). To investigate the dynam ics near the nucleus, we insert 2.11) and 2.12) into 2.8) and obtain the linearized equations ofm otion

$$
\begin{array}{ll}
\varrho_{t}^{\prime}=H^{s p} p & H^{s^{\prime}} ; \\
\varrho_{\mathrm{t}} \mathrm{p}=H^{\mathrm{s}^{\prime}}, & H^{\mathrm{sp}} \mathrm{p}: \tag{3.1}
\end{array}
$$

$N$ otice the unusualoccurrence of dam ping term sproportional to in the equations of $m$ otion for both ' and $p$. $T$ he reversible part of 3.1) is of H am iltonian structure. $T$ his is due to the fact that the $z$-com ponent of angular m om entum cos and the azim uthal angle are canonically conjugate variables. H ow ever, the signs in Eq. 3.1) are reversed com pared to a usual canonical theory since we are dealing $w$ th the $m$ agnetization rather than the angularm om entum.

The statically unstable $m$ ode has a dynam ical counterpart $\left(r^{\prime}(x ; t) ; p_{+}(x ; t)\right) / e^{+t}\left(r_{+}(x) ; p_{+}(x)\right)$ w th

+ > 0 which inserted into 3.1) obeys the coupled eigenvalue problem :

$$
\begin{align*}
& +^{\prime}+=H^{s p} \mathrm{p}_{+} \quad \mathrm{H}^{\mathrm{s}^{\prime}}{ }^{\prime}+; \\
& +\mathrm{p}_{+}=\mathrm{H}^{\mathrm{s}^{\prime}}{ }^{\prime}+\quad \mathrm{H}^{\mathrm{sp}} \mathrm{p}_{+} \text {; } \tag{32}
\end{align*}
$$

$w$ th the boundary conditions ${ }^{\prime}+\left(\frac{L}{2}\right)=p_{+}\left(\frac{L}{2}\right)=$ ${ }^{\prime}{ }_{+}^{0}\left(\frac{\mathrm{~L}}{2}\right)=\mathrm{p}_{+}^{0}\left(\frac{\mathrm{~L}}{2}\right)=0$. T he linearized equations 3.1) ofm otion can also be cast in a com pact form

$$
\begin{equation*}
@_{t} i(x ; t)=X_{j} M_{i j} H_{j}(x ; t): \tag{3.3}
\end{equation*}
$$

In (3.3) we have introduced

$$
\begin{equation*}
(x ; t) \quad(r(x ; t) ; p(x ; t)) \tag{3.4}
\end{equation*}
$$

and the dynam ic $m$ atrix

$$
\begin{equation*}
M=1^{1}: \tag{3.5}
\end{equation*}
$$

which is the sum of a sym plectic $m$ atrix describing the reversible part of the dynam ics and a diagonal positive de nite dissipative $m$ atrix. For the operators in (3.3) we have used the notation ( $\mathrm{H}_{1} ; \mathrm{H}_{2}$ ) ( $\mathrm{H}^{\mathrm{s}^{\prime}} ; \mathrm{H}^{\mathrm{sp}}$ ):

Eqns (3.3), and equivalently 3.1), describe the determ inistic m otion of the system in the vicinity of the saddle point. H ow ever, they are not consistent $w$ th the uctuation dissipation theorem since they lack the stochastic forces resulting from the coupling to the heat bath. W ithout these stochastic forces, the m agnetization w ould never be driven aw ay from the initial $m$ etastable state. Stochastic forces can be added to the rh.s. of 3.1) or (3.3) to yield the Langevin equation

$$
\begin{equation*}
\varrho_{t}(x ; t)=X_{j} M_{i j} H_{j}(x ; t)+{ }_{i}(x ; t) \tag{3.6}
\end{equation*}
$$

where ${ }_{i}$ is $G$ aussian white noise w ith $h_{i} i=0$ and

$$
\begin{equation*}
h_{i}(x ; t)_{j}\left(x^{0} ; t^{0}\right) i=\frac{2}{A} i j \quad(x \quad \text { \&) } \quad(t \quad \ell) \tag{3.7}
\end{equation*}
$$

where h: : :i denotes the average $w$ ith respect $t_{\mathrm{P}}$ the G aus sian noise distribution expf $A=(4) d t d x \quad$ i ${ }_{i}^{2} g$ and
$=1=k_{B} T$. The dynam ics of the probability distribution functional \% [ ( $x$ )] $=h_{i ; x} \quad(i(x ; t) \quad i(x)) i w i t h$ $i(x ; t)$ a solution of 3.6) is govemed 38 by the Fokker$P$ lanck equation

$$
\begin{equation*}
\varrho_{t} \%[(x)]=\mathrm{dx}_{i}^{\mathrm{X}} \frac{\mathrm{~J}_{i}}{i(x)} \text { : } \tag{3.8}
\end{equation*}
$$

The probability current is given by

$$
\begin{equation*}
J_{i}=X_{j} M_{i j} H_{j}(x)+\frac{1}{A} \sum_{j(x)} \%[(x)] ; \tag{3.9}
\end{equation*}
$$

In 3.9) we have exploited the antisym $m$ etry of the odiagonalpart ofM . N ote that the current is only de ned up to a divergenceless term. If we dem and in addition that the equilibrium density has vanishing current, the representation (3.9) is unique. Equations (3.9) and 3.9) have the follow ing properties:
i) The equations of $m$ otion for the them al expectation values $h^{\prime}$ i,hpi are identical to the expectation value $\mathrm{R}^{f}$ (3.3). [Expectartion values are de ned by $h^{\prime} i=$ $D^{\prime} D D^{\prime} \%$, where $D^{\prime}$ denotes functional integration.]
ii) The equilibrium density near the saddle point

$$
\begin{equation*}
\%_{\mathrm{eq}}=\mathrm{Z}^{1} \operatorname{expf} \quad \mathrm{AF}_{\mathrm{b}}^{(2)} \mathrm{g} ; \tag{3.10}
\end{equation*}
$$

w th $\mathrm{E}_{\mathrm{s}}^{(2)}$ as in 2.12), is a stationary solution of 3.8) w ith vanishing current. Z is a norm alization constant
arising from the condition that ${ }^{R} D^{\prime} D p \%{ }^{\circ}=1$ in the vicinity of the $m$ etastable state. Since $\circ_{\text {oq }}$ is sharply peaked around the $m$ etastable state, a G aussian approxim ation $m$ ay be used for the evaluation of $Z$. $N$ ote that the properties i), ii) also allow for a direct construction of the FokkerP lanck equation w thout $m$ aking use of the Langevin equation.

To calculate the nucleation rate, we have to construct a stationary nonequilibrium probability density. To maintain a constant probability ux over the saddle point we impose the boundary conditions \% ' \% neq near the $m$ etastable state and \% ' 0 beyond the saddle point. $N$ ote that the realization ofequilibrium at the m etastable state requires a barrier energy w hich should be large com pared to them al energies. As a criterion we $m$ ay use
$A E_{s}>5$. Since the prefactor is roughly of the order of the precession frequency $2 \mathrm{~K}_{\mathrm{e}}=\mathrm{M}{ }_{0}{ }^{,} 10^{10} \mathrm{~s}^{1}$, this inequality is satis ed even for very large sw itching rates and thus does not represent a restriction. T he total rate is then obtained as the probability ux integrated across a surface transversal to the unstable $m$ ode. The derivation is sim ilar to that of Langell and is presented in detail in the appendix. The sw itching probability per unit time of a particle $w$ th $m$ agnetization prepared in the $m$ etastable state into the stable state is then given by

$$
\begin{equation*}
=e^{\mathrm{AE}_{\mathrm{S}}} ; \tag{3.11}
\end{equation*}
$$

where $A$ is the cross sectionalarea of the sam ple and $E_{s}$ is the energy 2.15) per area of the nucleus. The prefactor is given as follow $s$

In (3.12) an explicit factor of 2 has been included, since the m etastable state $=\quad ; \quad=\quad=2 \mathrm{~m}$ ay decay via either one of the tw o equivalent saddle points. T he rst factor on the r.h.s. of (3.12) is the escape frequency of the unstable m ode as de ned by (32). This is the only term in 3.12) in which dynam ical details of the system enter. T he second factor arises from the integration over the zero frequency ( G oldstone) m ode and is de ned by $L={ }^{5} E_{s} L$, where $L$ is the system length and $E_{s}$ is the energy per unit area 2.15). The third factor is also due to the G oldstone m ode and determ ines the tem perature dependence of the prefactor. The rem aining factors basically arise from the functional integration of the partition function w ithin G aussian approxim ation 2.12) and 222). The determ inants are de ned as the products of eigenvalues

$$
\begin{equation*}
\frac{\operatorname{det} H^{m^{\prime}}}{\operatorname{det}^{0} \mathrm{H}^{\mathrm{s}^{\prime}} \mathrm{j}}=\frac{Q}{\mathrm{E}_{0}^{s^{\prime}} \mathrm{E}_{2}^{\mathrm{s}^{\prime}} \mathrm{E}_{\mathrm{k}^{\prime}}^{\mathrm{m}^{\prime}} \mathrm{E}_{\mathrm{k}^{0}}^{s^{\prime}}} ; \tag{3.13}
\end{equation*}
$$

$w$ here $k$ denotes scattering states. The prim e on det denotes om ission of the zero energy $\mathrm{E}_{1}^{\mathrm{s}^{\prime}}$. H ow ever, note
that the unstable mode $\mathrm{E}_{0}^{\mathrm{s}^{\prime}}<0$ enters 3.13) as if it w ere a stable one. $T$ he determ inant of out of easy-plane uctuations is de ned as

$$
\begin{equation*}
\frac{\operatorname{det} H^{m p}}{\operatorname{det} H^{s p}}=\frac{Q}{E_{0}^{s p} E_{1}^{s p} E_{k}^{m p}}{ }_{k^{0}} E_{k^{0}}^{s p}: \tag{3.14}
\end{equation*}
$$

Thebound state energies $\mathrm{E}_{0}^{\mathrm{s}^{\prime}}$ and $\mathrm{E}_{1}^{\mathrm{sp}}$ are given by 2.19) and 2.20). In paper I we obtained $\mathrm{E}_{2}^{\mathrm{s}^{\prime}},{ }^{2}(\mathrm{I}, 6.13)$ and $\mathrm{E}_{0}^{S^{\prime}}$ and $\mathrm{E}_{1}^{\mathrm{sp}}$ have been evaluated num erically for anditrary $R$.

Therefore we are left w th the task of evaluating the products of the continuum eigenvalues. The continuum eigenvalues of $\mathrm{H}^{\mathrm{s}^{\prime}}$ and $\mathrm{H}^{\mathrm{sp}}$ coincide $w$ ith those of $\mathrm{H}^{\mathrm{m}}$ ' and $H^{m}$, respectively, and are given by

$$
\begin{align*}
& \mathrm{E}_{\mathrm{k}}^{\mathrm{m}}=\mathrm{E}_{\mathrm{k}}^{\mathrm{s}^{\prime}}={ }^{2}+\mathrm{k}^{2} ; \\
& \mathrm{E}_{\mathrm{k}}^{\mathrm{mp}}=\mathrm{E}_{\mathrm{k}}^{\mathrm{sp}}=\mathrm{Q}^{1}+{ }^{2}+\mathrm{k}^{2}: \tag{3.15}
\end{align*}
$$

$N$ ote that these equalities do not im ply a cancellation of num erators and denom inators in (3.13) and (3.14), since the allow ed $k$-values are di erent and xed by the bondary conditions which we choose as periodic.

T he next sections are devoted to the explicit evaluation of the in nite products (3.13), (3.14) and the calculation of the escape frequency + .

## IV.EVALUATION OF THE STATISTICAL PREFACTOR

In the follow ing we describe tw o $m$ ethods for the evaluation of the statistical prefactors (3.13), 3.14).

The rst m ethod (see e.g. Ref. 35) is based on the know ledge of scattering phase shifts of the continuum eigen functions as w ell as the bound state energies of the operators $\mathrm{H}^{\mathrm{s}^{\prime}}, \mathrm{H}^{\mathrm{sp}}$. In strictly one dim ensional problem s one has to distinguish betw een the scattering phase shifts of odd and even parity wavefunctions. This is in sharp contrast to the fam iliar situation of a 3D s-w ave scattering problem where the scaled w avefiunction indeed obeys a 1D Schrodinger equation but is required to vanish at the origin_Sunprisingly, this issue has been ignored until recently 1312 , possibly also due to the fact that the m ost w idely used 1D potentials belong to the rather special class of re ectionless potentials for which scattering phase shifts of even and odd wavefunctions coincide.

So far, the present $m$ ethod for the evaluation of the prefactor has indeed been used only 3 in the case of reectionless potentials where the scattering phase shifts of even and odd w avefiunctions coincide. H ere, how ever, the potentials in $\mathrm{H}^{\mathrm{s}^{\prime}}$ and $\mathrm{H}^{\mathrm{sp}}$ only becom e re ectionless in the lim its $R$ ! 0 and $R$ ! 1 . For interm ediate values of $R$, the corresponding potentials are not re ectionless and scattering phase shifts of even and odd parity w avefunctions have to be distinguished.
$T$ here is another surprising feature of these operators. $T$ he num ber ofbound states of the operators which arise
in the $\lim$ its R ! 0 and R ! 1 di ers from those for nite values of $R$. This casts som e doubts on the usefulness of such operators for an approxim ation of the products (3.13), (3.14). H ow ever, by a carefiul analysis using the explicit form of Levinson's theorem in 1D, we show that the exact uctuation determ inants converge to those evaluated by $m$ eans of the lim iting operators.
$T$ he second $m$ ethod uses the explicit know ledge of the zero $m$ ode for the evaluation of the uctuation determ inants. This allow $s$ an exact determ ination of the statistical prefactor for the ' - uctuations. For p-uctuations an analytical treatm ent is only possible in the lim it $Q^{1}!0$.

These results can then be com bined to obtain analytical expressions for the total statistical prefactor in the lim it of sm all and large nuclei as well as in the lim its $Q^{1}!0$ and $Q^{1}$ ! 1 . In the $\lim$ it $Q^{1}{ }^{2}$ ! 1 corresponding to either sm all nuclei or large hard-axis anisotropy, the out of easy-plane uctuations are suppressed and do not contribute at all. W hile the latter result is to be expected from the fact that out of easyplane uctuations are suppressed due to theirm ass Q ${ }^{1}$, the form er result is som ew hat surprising. It is related to the divergence of the characteristic length scale for $R$ ! 0 which renders even a sm all hard-axis anisotropy $e$ ectively large. In both lim its the system $m$ ay be described by an e ective $m$ odeldiscarding the out of easyplane degree of freedom. As we will later address, this m odel is equivalent to a double sine-G ordon m odelin the azim uthal variable.

## A. Scattering phase shift m ethod

In this section we evaluate the products (3.13), 3.14) using the know ledge ofbound state energies and scattering phase shifts of the operators $H^{s^{\prime}}, H^{s p}$ which have been evaluated in paper I.

In order to evaluate the density of states we consider eigenfunctions obeying periodic boundary conditions. Them odes around them etastable state $(\mathrm{m} ; \mathrm{m})=$ ( ; =2), are then the plane wave eigenfunction eigenfunctions of the operators 223) which can also be written as $\sin k x, \operatorname{coskx} w$ th $w$ avenum bers

$$
\begin{equation*}
\mathrm{k}=\frac{2 \mathrm{n}}{\mathrm{~L}} ; \tag{4.1}
\end{equation*}
$$

where $n=0 ; 1 ;::$ :foreven parity and $n=1 ; 2 ;::$ :forodd parity continuum eigenstates. T he corresponding density of states is

$$
\begin{equation*}
{\underset{(j)}{i}}^{i}=\frac{d n}{d k}=\frac{L}{2} ; \quad i=' ; p ; \quad j=e ; 0: \tag{4.2}
\end{equation*}
$$

At the saddle point ( s ; s) $=(\mathrm{s}(\mathrm{x})$; =2), how ever, we encounter a di erent situation. The nonuniform ty of the nucleus, i.e. the nonconstant potentials in $\mathrm{H}^{\mathrm{s}^{\prime}}$; H sp lead to phase shifts of the continuum eigenfunctions. In
contrast to 3D problem s, where the wavefunction alw ays vanishes at the origin, we have to distinguish betw een the phase shiffs ofeven (e) and odd (o) parity wavefunctions. W e de ne phase shifts as in paper I

$$
\begin{align*}
& \operatorname{si}_{\mathrm{ki}(\mathrm{e})}\left(\mathrm{x}!\quad 1 \text { )/ } \cos \mathrm{kx} \quad{ }_{(\mathrm{e})}^{\mathrm{i}}(\mathrm{k})=2\right. \text {; }  \tag{4.3}\\
& \underset{k ;(0)}{\operatorname{si}_{i}}\left(\mathrm{x}!1 \text { )/ } \sin k x \quad{ }_{(0)}^{i}(k)=2 ; \quad i=r ; p:\right. \tag{4.4}
\end{align*}
$$

Since only the eigenfunctions of $\mathrm{H}^{\mathrm{s}}$ 'ip exhibit a phase shift, we have om itted the superscript s on . N ote that allphase shifts also depend on the param eter R. Periodic boundary conditions together w ith 4.3), 4.4) im ply

$$
\begin{equation*}
k L+{ }_{(j)}^{i}(k)=2 n ; n=1 ; 2 ;::: ; \tag{4.5}
\end{equation*}
$$

where $i=$ ' ;p and $j=e ; o$. Follow ing the argum ents of Ref. 11, the lowest allow ed 36 k -values in 4.5) are $\mathrm{k}=2=\mathrm{L}$ for odd parity eigenfunctions and $\mathrm{k}=\mathrm{L}$ for even parity eigenfunctions. N ote the surprising fact that the latter value does not coincide w ith the low est $k$-value 4.1) of even-parity solutions in the absence of a potential.

The density of states for odd-parity continuum eigenfunctions follow s from 4.5)

$$
\begin{equation*}
\underset{(0)}{\operatorname{si}}(k)=\frac{d n}{d k}=\frac{L}{2}+\frac{1}{2} \frac{d{ }_{(0)}^{i}(k)}{d k} ; \quad i=, ; p: \tag{4.6}
\end{equation*}
$$

Since the spectrum of even-parity continuum eigenfunctions starts at $\mathrm{k}=\mathrm{L}$ while free solutions start at $\mathrm{k}=0$, the density of states exhibits an additional -fiunction contribution at k! 0

$$
\begin{equation*}
\underset{(\mathrm{e})}{\mathrm{si}}(\mathrm{k})=\frac{\mathrm{L}}{2}+\frac{1}{2} \frac{\mathrm{~d}_{\stackrel{i}{i}(\mathrm{e})}(\mathrm{k})}{\mathrm{dk}} \quad \frac{1}{2} \quad(\mathrm{k} \quad 0) ; \quad i={ }^{\prime} ; p: \tag{4.7}
\end{equation*}
$$

This -function also ensures that the num ber of states of the free problem equals that of the scattering problem including bound states
where, according to ( $I, 625$ )

$$
\begin{equation*}
\mathrm{N}_{(\mathrm{e})}^{\mathrm{p}}=\mathrm{N}_{(0)}^{\mathrm{p}}=\mathrm{N}_{(0)}^{\prime}=1 ; \quad \mathrm{N}_{(\mathrm{e})}^{\prime}=2: \tag{4.9}
\end{equation*}
$$

are the num ber of even- and odd-parity bound states of $\mathrm{H}^{\mathrm{s}^{\prime}}$ and $\mathrm{H}^{\mathrm{sp}}$. Eq (4.8) w th 4.9) is veri ed using (4.6), 4.7) and 1D Levinson's theorem (I.6 23,24) which states that

$$
\begin{align*}
& p_{(e)}(k=0)=\quad ; \quad{ }_{(0)}^{p}(k=0)=2 ; \\
& (e)(k=0)=3 ;
\end{aligned} \quad \begin{aligned}
& (0)(k=0)=2: \tag{4.10}
\end{align*}
$$

W e are now in a position to express the ratio of the products in 3.13) in term s of the density of states:

$$
\begin{align*}
& \ln \mathrm{E}_{\mathrm{k}}^{\mathrm{si}} \text {; } \tag{4.11}
\end{align*}
$$

where $i=' ; p$. A fter inserting (3.14), (4.6), 4.7) into 4.11), using 4.12) and perform ing a partial integration we obtain for the' - uctuations
where we used the fact that the phase shifts vanish as $1=\mathrm{k}$ for k ! 1 according to Bom's approxim ation ( 1,629 ). In a com pletely analogous way we obtain for the p - uctuations

$$
\begin{align*}
& Q_{k^{0} E_{k}^{m p}}^{E_{k^{0}}^{\mathrm{sp}}}=Q^{1}+2^{2} \tag{4.13}
\end{align*}
$$

N ote that in contrast to 4.11), the integrands in 4.12) and (4.13) are independent of the $\mathrm{k}!0 \mathrm{~lm}$ it which due to Levinson's theorem is sensitive to the num ber ofbound states. This fact renders (4.12) and 4.13) suitable for phase shift approxim ations that converge nonuniform ly to the exact phase shiffs for $\mathrm{k}!0$.

In the next two subsections we explicitly evaluate the prefactor in the lim it of sm all and large nuclei. W e show that taking the $\lim$ it $R!0 ; 1$ of 4.12), 4.13) is equivalent to a direct evaluation of the determ inants of the operators that arise in these lim its.

## 1. P refactor for $h$ ! 1

In the lim it R ! 0,when the extemal eld is very close to the anisotropy eld, the nucleus represents a slight but spatially extended deviation from the $m$ etastable state. The operators $H^{s^{\prime}}$ and $H^{s p}$ given by 2.13) and (2.14) then reduce to

$$
\begin{align*}
& H^{s^{\prime}}=\frac{d^{2}}{d x^{2}}+{ }^{2}\left(1 \quad 6 \operatorname{sech}^{2} \frac{x}{-}\right)  \tag{4.14}\\
& H^{s p}=\frac{d^{2}}{d x^{2}}+{ }^{2}\left(\begin{array}{ll}
1 & 2 \operatorname{sech}^{2} \frac{x}{-}
\end{array}\right)+Q^{1} \tag{4.15}
\end{align*}
$$

$T$ he potentials in 4.14), 4.15) are re ectionless and the solution of the corresponding eigenvalue problem s is well known (see also the appendix of paper I). There are bound states w ith the follow ing energies

$$
\begin{align*}
& \mathrm{E}_{0}^{\mathrm{s}^{\prime}}=3^{2} ; \mathrm{E}_{1}^{\mathrm{s}^{\prime}}=0 ; \\
& \mathrm{E}_{0}^{\mathrm{sp}}=\mathrm{Q}^{1}: \tag{4.16}
\end{align*}
$$

$N$ ote that the tw o eigenvalues $E \frac{s^{\prime}}{\overbrace{}^{\prime}} \mathrm{E}_{1}^{\mathrm{sp}}$ of $\mathrm{H}^{\mathrm{s}^{\prime}}$ and $\mathrm{H}^{\mathrm{sp}}$ tum into zero energy resonances ${ }^{37}$ of $\mathrm{H}^{\mathrm{s}^{\prime}}$ and $\mathrm{H}^{\mathrm{sp}}$ and have therefore no counterparts in 4.18). The continuum eigenvalues of 4.14) and (4.15) are given by 3.15), respectively. Since the potentials are re ectionless the scattering phase shifts are parity independent and given by

$$
\begin{gather*}
(k)=2 \arctan \frac{3 k}{(k)^{2}} 2^{\prime}  \tag{4.17}\\
{ }^{p}(k)=2 \arctan \frac{1}{k} ; \tag{4.18}
\end{gather*}
$$

and their long w avelength behavior

$$
\begin{equation*}
(k!0)=2 ; \quad{ }^{p}(k!0)=; \tag{4.19}
\end{equation*}
$$

is in accordance w ith Levinson's theorem $(1,627)$ for reectionless potentials. A s has been discussed in paper I, Sec. VI.B, the convergence of ' , $p$ tow ards the exact phase shifts ${ }_{(j)}^{s i}$ is in general nonuniform for $k=0$ (cf. Figs. I.6,7). H ow ever, since the integrand in 4.12) and 4.13) vanishes for $k=0$, we can safely insert the approxim ations 4.17) and 4.18) into 4.12), 4.13), respectively, and obtain

$$
\begin{equation*}
\lim _{R!0}^{Q} \frac{Q E_{k}^{m}}{E_{k^{0}} E_{k^{0}}^{s^{\prime}}}=36{ }^{6} ; \tag{420}
\end{equation*}
$$

and

$$
\lim _{R!0}^{Q} \frac{Q E_{k}^{m p}}{\mathrm{k}^{0} E_{k^{0}}^{s p}}=Q^{2} ;
$$

respectively. For the evaluation of the determ inants, we substitute the bound states 4.16) for those in 3.13) and 3.14). H ow ever, we have to com plete 4.18) by the zero energy resonances $\mathrm{E}_{2}^{\mathrm{s}^{\prime}}={ }^{2}, \mathrm{E}_{1}^{\mathrm{sp}}=\mathrm{Q}^{1}+{ }^{2}$. Together w ith 4.20) and 4.21), we then obtain

$$
\begin{equation*}
\lim _{R!} \frac{\operatorname{det}^{m^{\prime}}}{\operatorname{det}^{0} \mathrm{H}^{\mathrm{s}^{\prime}}} \mathrm{j}=12 \quad 2 ; \tag{422}
\end{equation*}
$$

and

$$
\begin{equation*}
\lim _{R!} \frac{\operatorname{det} H^{m p}}{\operatorname{det} H^{s p}}=1 ; \tag{4.23}
\end{equation*}
$$

where in 4.20), 4.22), $\quad 2=R^{2}$. The result 4.23) is rem arkable since it shows that the uctuations in $p$ direction do not play a role at all for sm all nuclei, independent of the size of the hard-ax is anisotropy constant. $T$ his suggests that in the lim it $R$ ! 0 the system $m$ ay effectively be described by a double sine-G ordon equation in the azim uthalangle. W e shall retum to this issue in Sec. VII.

A ltematively, although less carefully, we can interchange the lim it $R$ ! 0 w th the functional integration, and directly calculate

$$
\begin{align*}
& \frac{\operatorname{det} H^{m}}{\operatorname{det}^{0} H^{s^{\prime}} j}=\frac{Q}{E_{Q}^{s^{\prime}} \mathrm{k}_{\mathrm{Q}}^{\mathrm{E}} \mathrm{k}_{\mathrm{k}^{0}} E_{k^{s^{0}}}} ; \\
& \frac{\operatorname{det} H^{m p}}{\operatorname{det} H^{s p}}=\frac{E_{0}^{\text {sp }} \mathrm{E}_{\mathrm{k}}^{\mathrm{mp}}}{\mathrm{k}^{0} \mathrm{E}_{\mathrm{k}^{0}}^{\mathrm{sp}}} \text { : } \tag{4.24}
\end{align*}
$$

For the evaluation of the r.h.s. in 4.24) we proceed sim ilarly to the derivation of 4.12) and (4.13) w ith the follow ing $m$ odi cations: The density of states $\underset{(j)}{\mathrm{m}} \mathrm{i}_{(\mathrm{j})}^{\mathrm{si}}(\mathrm{k})$ in
 w ith i given by 4.17) and 4.18) ( $i=1$;p). U sing the version 4.19) of Levinson's theorem together w ith 4.17) and 4.18), we recover the results 4.22) and 4.23) after integration.

To sum $m$ arize, we thus have shown that the sm all nucleus approxim ation $m$ ay be used for the evaluation of the uctuation determ inants, or explicitly

$$
\begin{array}{r}
\lim _{R!} \frac{{\operatorname{det} H^{m}}^{m^{\prime}}}{\operatorname{det}^{0} H^{s^{\prime}} j}=\frac{\operatorname{det}^{m^{\prime}}}{\operatorname{det}^{0} H^{s^{\prime}} j^{\prime}} \\
\lim _{R!} \frac{\operatorname{det} H^{m p}}{\operatorname{det} H^{s p}}=\frac{\operatorname{det}^{m p}}{\operatorname{det} H^{s p}}: \tag{4.25}
\end{array}
$$

where the r.h.s. has been evaluated in leading order in R. The relation 4.25) has not been clear on the onset, since the operators $H^{s^{\prime}}, H^{s p}$ exhibit a di erent num ber ofbound states and di erent long w avelength behavior of the scattering phase shifts than the operators $\mathrm{H}^{\mathrm{s}^{\prime}}, \mathrm{H}^{\mathrm{sp}}$. A s we have show n now, these tw o di erences conspire in such a way that an interchange of the lim its in 4.25) is indeed correct.

## 2. P refactor for $h!0$

For R 1 the nucleus separates into tw o independent B loch walls. C orrespondingly $\mathrm{H}^{\mathrm{s}^{\prime}}$ and $\mathrm{H}^{\text {sp }} \mathrm{m}$ erge into the sam e operator $\hat{H}^{s}$ which consists of tw $o$ independent potential wells of the form $2^{2} \operatorname{sech}^{2}(x=R)$. The bound states of $\hat{H}^{s}$ are then given by the sym $m$ etric and antisym $m$ etric linear com binations of the ground states of the single wells and have energies (cf. ( $I, 6.4,6.6$ ))

$$
\begin{align*}
& \hat{E}_{0}^{s p}=Q^{1} ; \quad \hat{E}_{1}^{s p}=Q^{1}+8 e^{2 R} ; \\
& \hat{\mathrm{E}_{0}^{s^{\prime}}}=8 \mathrm{e}^{2 \mathrm{R}} ; \quad \hat{\mathrm{E}_{1}^{s^{\prime}}}=0 \text {; } \tag{4,26}
\end{align*}
$$

$N$ ote, that in this approxim ation $E_{2}^{s^{\prime}}$ has $m$ erged into a zero energy resonance of $\hat{H}^{s}$. The continuum eigenvalues are identical to (??) while the scattering phase shifts are tw ige those of a single potential well (cf. 4.18))

$$
\begin{equation*}
\wedge^{s}(k)=4 \arctan \frac{1}{k}: \tag{4.27}
\end{equation*}
$$

The coincidence of the phase shifts ofeven and odd eigenfunctions originates from the fact that the tw $02 \operatorname{sech}^{2} x$ potential wells are re ectionless. T he phase shifts 4.27) obey the re ectionless version of Levinson's theorem, i.e.
$\hat{\text { Delta }}(\mathrm{k}!0)=\mathrm{N}$ with N the number of bound states. But as in the previous subsection, the phase shifts ${ }_{\left({ }^{\prime}\right)}^{(e)}$ and $\underset{(\text { e) }}{\text { sp }}$ only converge on the open interval $0<k<1$ towards ${ }^{\wedge}{ }^{s}$. Inserting 4.27) into (4.12), (4.13), and using 4.26) together with $\mathrm{E}_{2}^{\mathrm{S}}=2$ in (3.13), (3.14), we obtain

$$
\begin{gather*}
\lim _{R!1} \frac{\operatorname{det}^{m^{\prime}}}{\operatorname{det}^{0} \mathrm{H}^{s^{\prime}} j}=2 \mathrm{e}^{2 R} ;  \tag{428}\\
\lim _{R!1} \frac{\operatorname{det} H^{m p}}{\operatorname{det} H^{s p}}=[\overline{1+Q}+\mathrm{p} \bar{Q}]^{4}: \tag{4.29}
\end{gather*}
$$

The latter result approaches 1 for large hard-axis an isotropies as expected. H ow ever, in the opposite lim it of high $Q$, the $p$ - uctuations lead to a prefactor 3.12) proportional to $Q$.

$$
\text { 3. O ut of easy plane uctuations for } Q^{1} 2^{2}!1
$$

A large hard-axis anisotropy leads to the suppression of out of easy-plane uctuations by the existence of a large $m$ ass gap. Therefore we expect the uctuation determ inant to becom e one in this lim it.

To prove this con jecture, we rem ark that $\begin{gathered}\mathrm{sp} \\ \text { (e), }\end{gathered} \quad \begin{gathered}\mathrm{sp} \\ \text { (o) }\end{gathered}$ are continuous functions which are proportional to $1=k$ for k ! 1 according to Bom's approxim ation ( $I, 6$ 29) and rem ain nite fork! 0 due to Levinson's theorem. Therefore both phase shifts obey the inequality (k) < $\mathrm{c}=\mathrm{k} \quad \mathrm{w}$ th a suitably chosen constant c. For the integral in 4.13) we thus obtain the follow ing inequality

where $d=\left(c_{(e)}^{p}+c_{(0)}^{p}\right)=2$. Since $d$ is independent ofQ, the upper lim it tends to zero for $Q^{1} 2!1$ and therefore we have with $\mathrm{E}_{0}^{\mathrm{sp}} \quad \mathrm{Q}^{1}, \mathrm{E}_{1}^{\mathrm{sp}}=\mathrm{Q}^{1}+\mathrm{N}^{2}$ with $0<$ $"<1$ and (4.13), 3.14)

$$
\begin{equation*}
\lim _{\lim _{12}^{2}!1} \frac{\operatorname{det}^{m p}}{\operatorname{det} H^{s p}}=1: \tag{4.31}
\end{equation*}
$$

In fact we have now shed some new light on the result (423). The hard-axis anisotropy does not enter in isolated form but rather in the combination $Q^{12}=$ Q ${ }^{1} \mathrm{coth}^{2} \mathrm{R}$ which show sthat due to the diverging length scale, the hard-axis anisotropy becom es e ectively strong for $s m$ all $R$, no $m$ atter how $s m$ all $Q^{1}$ is.

> B. Jacobim ethod

There is also an altemative way for evaluating the products of eigenvalues which has its origin in the space
slice representation of the path integrals. This m ethod allow s for the exact evaluation of the statisticalprefactor in the' -variable for all values of $R$. In the lim it $Q{ }^{1}=0$ we are also able to evaluate the prefactor for out of easyplane uctuations. W e rst show how this $m$ ethod can be applied to the evaluation of (3.13). A ccording to $R$ ef. 34 we have

$$
\begin{equation*}
\frac{\operatorname{det}_{\mathrm{L}} H^{\mathrm{m}^{\prime}}}{\operatorname{det}_{\mathrm{L}} H^{\mathrm{s}^{\prime}}}=\frac{\mathrm{D}^{(0)}(\mathrm{L}=2)}{\mathrm{D},(\mathrm{~L}=2)} \tag{4.32}
\end{equation*}
$$

The notation det on the lh.s. of 4.32) indicates that the evaluation of the determ inants relies on eigenvalue problems de ned on the nite interval [ $L=2 ; L=2]$ w ith respect to functions that vanish at the end of the interval. The functions D, and $D{ }^{(0)}$ on the rh.s. of 4.32) are solutions of the di erential equations

$$
\begin{array}{r}
H^{s^{\prime}} D,(x)=0 ; \\
\frac{d^{2}}{d x^{2}}+2 D^{(0)}(x)=0 ; \tag{4.34}
\end{array}
$$

w ith the follow ing \initial" conditions (the prim e denotes $d=d x$ )

$$
\begin{gather*}
\mathrm{D},(\mathrm{~L}=2)=0 ; \quad \mathrm{D},(\mathrm{~L}=2)=1  \tag{4.35}\\
\mathrm{D}^{(0)}(\mathrm{L}=2)=0 ; \quad \mathrm{D}^{(0)}(\mathrm{L}=2)=1: \tag{4.36}
\end{gather*}
$$

$N$ ote that on the nite interval the rst excited eigenfunction of $\mathrm{H}^{\mathrm{s}^{\prime}}$ has no longer zero energy and therefore the lh s of (4.32) is wellde ned. T he eigenvalue problem of this quasi zero-energy $m$ ode is $w$ ritten as

$$
\begin{equation*}
\mathrm{H}^{\mathrm{s}^{\prime}} \mathrm{f}=\mathrm{f} ; \tag{4.37}
\end{equation*}
$$

where for large system lengths $L$, $>0$ is small, and $f$ obeys the boundary conditions $f(\mathrm{~L}=2)=\mathrm{f}^{0}(\mathrm{~L}=2)=0$. N ote that for $L!1$ we have $f!\begin{aligned} & s^{\prime} \\ & 1\end{aligned}$ and ! 0. The uctuation determ inant is then obtained as follow s:

$$
\begin{equation*}
\frac{\operatorname{det} H^{m^{\prime}}}{\operatorname{det}^{0} \mathrm{H}^{s^{\prime}} j}=\lim _{\mathrm{L}!1} \frac{\mathrm{D}^{(0)}(\mathrm{L}=2)}{\mathrm{D},(\mathrm{~L}=2)}: \tag{4.38}
\end{equation*}
$$

W e now tum to the evaluation of the rh.s. of 4.38). $D^{(0)}(L=2)$ is easily obtained by integration of 4.34) w ith 4.36)

$$
\begin{equation*}
D^{\prime}{ }^{(0)}(\mathrm{L}=2)=\sinh (\mathrm{L}=)^{\prime} \frac{-}{2} \mathrm{e}^{\mathrm{L}=}: \tag{4.39}
\end{equation*}
$$

The function $D,(x)$ obeys the sam e di erential equation (4.33) as the zero m ode ${ }_{1}^{s^{\prime}}$ (x) 2.20), but sub ject to di erent boundary conditions (4.35). Therefore $D,(x)$ is a linear combination of ${ }_{s^{\prime}}{ }_{1}^{s^{\prime}}(x)$ and the unknown linear independent solution $\begin{array}{ll}s^{\prime} \\ 1 & (x) \text { of the di erential equation }\end{array}$ 4.33)

$$
\begin{equation*}
D,(x)=u \underset{1}{s^{\prime}}(x)+v_{1}^{s^{\prime}}(x) ; \tag{4.40}
\end{equation*}
$$

w ith realconstantsu;v. $\begin{gathered}s^{\prime} \\ 1\end{gathered}$ is taken to be unnorm alized

$$
\begin{equation*}
\stackrel{s}{\prime}_{1}^{\prime}=\frac{d s_{s}}{d x}=1[\operatorname{sech}(x=\quad R) \quad \operatorname{sech}(x=+R)]: \tag{4.41}
\end{equation*}
$$

The norm alization of $\begin{gathered}s^{\prime} \\ 1\end{gathered}(x)$ is chosen such that the W ronskian

$$
\begin{equation*}
\frac{s^{\prime}}{1} \frac{@_{1}^{s^{\prime}}}{@ \mathrm{x}} \quad \frac{\mathrm{~s}^{\prime}}{1} \frac{@^{s^{\prime}}}{@ \mathrm{x}}=1: \tag{4.42}
\end{equation*}
$$

In order to satisfy the initial conditions 4.35), we m ust have

$$
\begin{equation*}
u=s_{1}^{s^{\prime}}(\quad L=2) ; \quad v={ }_{1}^{s^{\prime}}(\quad L=2): \tag{4.43}
\end{equation*}
$$

From 4.41) we infer the asym ptotic behaviour

$$
\begin{equation*}
\mathrm{s}_{1}^{\mathrm{s}^{\prime}} \text { ! } \mathrm{N} \operatorname{sgn}(\mathrm{x}) \mathrm{e}^{\mathrm{x} \mathrm{x} j} \text {; for } \mathrm{x}!\quad 1 \text {; } \tag{4.44}
\end{equation*}
$$

w ith

$$
\begin{equation*}
\mathrm{N}=4^{1} \sinh \mathrm{R}: \tag{4.45}
\end{equation*}
$$

The sym $m$ etry of the potential in $\mathrm{H}^{\mathrm{s}^{\prime}}$ and the antisym $m$ etry of $\begin{gathered}s^{\prime} \\ 1\end{gathered}$ allow us to choose $\begin{gathered}s^{\prime} \\ 1\end{gathered}$ as a symmetric function which has the asym ptotic behaviour

$$
\begin{equation*}
s_{1}^{\prime}!N^{0} e^{j x j} ; \text { for } x!\quad 1 \text { : } \tag{4.46}
\end{equation*}
$$

From (4.42) it follow s that

$$
\begin{equation*}
\mathrm{N}^{0}=\frac{}{2 \mathrm{~N}} ; \tag{4.47}
\end{equation*}
$$

and therefore w ith 4.43)-4.47) we have

$$
\begin{equation*}
D,(L=2)=\quad: \tag{4.48}
\end{equation*}
$$

Finally we are left with the evaluation of . The eigenfunction $f \mathrm{~m}$ ay to rst order in be expressed as

$$
f(x)=(x)+\sum_{L=2}^{Z=2} G(x ; y) \quad(y) d y ;
$$

w ith the G reen's function

The quasi zero-energy eigenvalue is now determ ined such that $\mathrm{f}(\mathrm{L}=2)=0$. The function is a solution of the hom ogeneous problem 4.33) which satis es the boundary condition $(\mathrm{L}=2)=0$,

$$
\begin{equation*}
(x)={ }_{1}^{s^{\prime}}(x)+c_{1}^{s^{\prime}}(x) ; \tag{4.51}
\end{equation*}
$$

w ith

$$
\begin{equation*}
c=\quad s_{1}^{s^{\prime}}(\quad \mathrm{L}=2)={ }_{1}^{s^{\prime}}(\mathrm{L}=2): \tag{4.52}
\end{equation*}
$$

$T$ he requirem ent $f(L=2)=0$ then leads to

Since the norm alization of $\begin{gathered}s^{\prime} \\ 1\end{gathered}$ is independent of $L$, the rst term in the denom inator is of the order $\exp (L=2)$ whereas the second vanishes asexp ( $\mathrm{L}=2$ ) and thusm ay be neglected. In leading order in $\exp (\mathrm{L}=)$ we thus obtain

$$
\begin{equation*}
=\frac{2 \underset{1}{1}(\mathrm{~L}=2)}{\mathrm{R}_{\mathrm{L}=2}^{\mathrm{R}(\mathrm{~L}=2)_{\mathrm{L}=2}^{2}(\mathrm{y})}}=\frac{64{ }^{3} \sinh ^{2} \mathrm{R}}{\mathrm{E}_{\mathrm{S}}(\mathrm{R})} e^{\mathrm{L}=} \text {; } \tag{4.54}
\end{equation*}
$$

where we have m ade use of 4.41) and ( $1,3.12$ ). Inserting 4.39) (4.48) and 4.54) into (4.38) and perform ing the lim it L! 1 , we nally obtain the result

$$
\begin{equation*}
\frac{\operatorname{det}^{m}{ }^{\prime}}{\operatorname{det}^{0} \mathrm{H}^{s^{\prime}} j}=\frac{8 \tanh ^{3} R \sinh ^{2} R}{\tanh R \quad R \operatorname{sech}^{2} R}: \tag{4.55}
\end{equation*}
$$

which is exact for all values of the extemal eld. N ote that in the lim its R ! 0 and R ! 1 , Eq. 4.55) reduces to the results 4.22), 4.28), respectively.
$T$ he abovem ethod cannot be used for the evaluation of the p-determ inants 4.58) for arbitrary values of the hardaxis anisotropy since the zero energy eigenfunction of sp is not explicitly known. In the lim it of $s m$ all $Q^{12}$, how ever, the uctuation determ inant $m$ ay be calculated exactly:

TheQ ${ }^{1}$-independent operator $H^{s p} \quad Q^{1}$ exhibits the zeronenergy m ode ${ }_{0}^{\text {sp }}$ and we can proceed along the sam e lines $4^{40}$ as in the derivation of 4.55) to obtain

$$
\begin{equation*}
\frac{\operatorname{det}\left(H^{m p} \quad Q^{1}\right)}{\operatorname{det}^{0}\left(H^{s p} \quad Q^{1}\right)}=\frac{8 \tanh ^{3} R \cosh ^{2} R}{\tanh R+R \operatorname{sech}^{2} R} \tag{4.56}
\end{equation*}
$$

where the prime denotes om ission of the zero engroy m ode . From 4.11) with 3.15 it follows that $\left.{ }_{k} E_{k_{1}}^{m p}={ }_{k}^{0} E_{k}^{0 s p}=E_{k}^{m p} \quad Q^{1}\right)={ }_{k}^{0}\left(E_{k}^{0 s p} \quad Q^{1}\right)+$ $O$ ( $Q{ }^{1}{ }^{2}$ ). W th (3.14) we then obtain in leading order in the small param eter Q ${ }^{1} 2$

$$
\begin{align*}
\frac{\operatorname{det} H^{\mathrm{mp}}}{\operatorname{det} H^{s p}} & =\frac{1}{\mathrm{E}_{0}^{\mathrm{sp}}} \frac{\mathrm{E}_{1}^{\mathrm{sp}}}{\mathrm{E}_{1}^{\mathrm{sp}} Q^{1}} \frac{\operatorname{det}\left(\mathrm{H}^{\mathrm{mp}} \mathrm{Q}^{1}\right)}{\operatorname{det}^{0}\left(H^{\mathrm{sp}} \mathrm{Q}^{1}\right)} \\
& =Q \frac{\mathrm{E}_{1}^{\mathrm{sp}} \mathrm{Q}^{1}}{\mathrm{E}_{1}^{\mathrm{sp}}} \frac{8 \tanh ^{3} \mathrm{R} \cosh ^{2} R}{\tanh R+R \operatorname{sech}^{2} R}: \tag{4.57}
\end{align*}
$$

$T$ he second factor on the r.h.s has been retained since the coe cients of its power expansion in $Q 12$ diverge for $R$ ! 1 . However, in the $\lim$ it $Q^{1} \quad E_{1}^{s p}(R$ not too large), it reduces to one. N ote that the result (4.57) is only valid for Q ${ }^{1}{ }^{2} \mathrm{sm}$ all and it can therefore not be used for $R$ sm all. In this latter case 4.31) applies.

W ith the exact result (4.55), the prefactor (3.12) now takes the follow ing form

$$
\begin{equation*}
=+\mathrm{L} \overline{\mathrm{~A}} \frac{4}{3=2} \tanh ^{3=2} R \sinh R \frac{\mathrm{r}}{\frac{\operatorname{det} \mathrm{H}^{\mathrm{m} p}}{\operatorname{det} \mathrm{H}^{\mathrm{sp}}}} \text {; } \tag{4.58}
\end{equation*}
$$

which is further evaluated in the follow ing section.

## V.NUCLEATION RATES IN THE OVERDAMPED LIM IT

In this section we shall derive analytical results for the prefactor 4.58 ) in the lim it of large and sm all values of Q $1^{2}$ as well as large R. In the interm ediate param eter range the prefactor is evaluated num erically. T he discussion in this section is restricted to the regim e of large dam ping . The case ofm oderate dam ping which is m ore relevant for real system $s$ shall be discussed in the next section.

W e start w ith the evaluation of the decay frequency + of the nucleus. For large values of the dam ping constant
, the equations 3.2) characterizing the unstable m ode of the nucleus decouple and take the form

$$
\begin{array}{ll}
+\prime+= & H^{\mathrm{s}^{\prime} \prime}+; \\
+\mathrm{p}_{+}= & \mathrm{H}^{\mathrm{sp}} \mathrm{p}_{+} ; \tag{5.1}
\end{array}
$$

w ith $+>0$. The unstable mode is thus given by the ground state of $\mathrm{H}^{s^{\prime}}$, i.e. $\left({ }^{\prime}+; \mathrm{p}_{+}\right) /\left(\begin{array}{c}s^{\prime} \\ 0\end{array} ; 0\right)$ and for large the corresponding escape frequency is given by

$$
\begin{equation*}
+=\Xi_{0}^{s^{\prime}}(R) j: \tag{52}
\end{equation*}
$$

The eigenvalue $\mathrm{E}_{0}^{s^{\prime}}(\mathrm{R})$ has been investigated in paper I. It is known analytically in the $\lim$ its $R \quad$ ! $0 ; 1$ (cf. 4.16), 426) respectively) which allow s an explicit evaluation of the prefactor in these lim its.
i) For large nuclei ( $R$ ! 1 ) we m ay use 426), 429), and together w ith $E_{s}$ ! 4 and the prefactor 4.58) takes the follow ing form

$$
\begin{equation*}
=L^{p} \bar{A}_{3=2}^{16}{ }^{h p} \bar{Q}+\overline{1+Q}^{i_{2}} e^{R}: \tag{5.3}
\end{equation*}
$$

ii) For Q 12 1, 4.31) and (5.2) m ay be inserted into 4.58) to yield

$$
\begin{equation*}
=L^{P} \bar{A} \frac{4}{3=2} \exists_{0}^{s^{\prime}}(R) j \tanh ^{3=2} R \quad \sinh R: \tag{5.4}
\end{equation*}
$$

For sm all R , this reduces to

$$
\begin{equation*}
=L^{P} \frac{A}{A} \frac{12}{3=2} R^{9=2}: \tag{5.5}
\end{equation*}
$$

N ote that the results, 5.4) and 5.5) are both independent of the value of the hard-axis anisotropy.
iii) In the $\lim$ 达 $Q^{1} 2$ ! 0 we can use 4.58) and 4.57) to obtain

$$
\begin{align*}
&=\quad \mathrm{P} \frac{1}{A} \frac{8^{\mathrm{P}} 2}{3=2} \mathrm{E}_{0}^{s^{\prime}}{ }_{j}^{\mathrm{p}} \overline{\mathrm{Q}} \frac{\mathrm{E} \mathrm{E}_{1}^{\mathrm{sp}} Q^{1}}{E_{1}^{s p}} \\
& \frac{\tanh ^{2} R \sinh ^{2} R}{\tanh R+R \operatorname{sech}^{2} R} \tag{5.6}
\end{align*}
$$

Forvalues ofR such that $Q{ }^{1} \quad \mathrm{E}_{1}^{\mathrm{sp}}(\mathrm{R})$, the square root containing $\mathrm{E}_{1}^{\mathrm{sp}}$ reduces to 1 . In the lim it $\mathrm{R}!1$, Eqn 5.6) reduces to (5.3) w ith $Q^{1}$ ! 0

N ote how ever, that the present theory is only valid for hard-axis anisotropies which are not too sm all such that the am plitude of out of easy-plane uctuations is $m$ uch sm aller than one. Requiring the them al expectation value hp ${ }^{2}$ i w ith respect to the Boltzm ann weight expf $A \mathrm{~F}_{\mathrm{s}}^{(2)} \mathrm{g} \mathrm{w}$ ith $\mathrm{E}_{\mathrm{s}}^{(2)}$ as in 2.12) to be sm aller than one and noting that the low est eigenvalue in p-direction is $E_{0}^{s p}=Q{ }^{1}$, we obtain for the validity of the present theory the condition $A P \overline{A K}_{e} K_{h}=K_{e}>1$.

For all other param eter values the prefactor has been evaluated num erically. T he corresponding results are show $n$ in $F$ ig. 3 w ith the dashed and dashed-dotted lines representing the asym ptotic form ulas 5.3) and 5.5) respectively. R einstating the units 2.4) we recognize that the prefactor 3.12) is inversely proportional to a fact which is in accordance w ith the generalbehavior 16 of nucleation rates in the overdam ped lim it.

## VI.NUCLEATION RATE FOR MODERATE D A M P IN G

In the last section we have presented results for nucleation rates of them ally activated $m$ agnetization reversal in the overdam ped lim it. In that case, the decay of the nucleus is govemed by purely dissipative $m$ echanism $s$. H ow ever, in ferrom agnetic $m$ aterials the dam ping constant is usually of the order $=10^{2}$ or som etim es as $s m$ all as $10^{4}$ in som e high purity $m$ aterials such as Y IG.

A ccording to 3.12), the dynam iqproperties of the sys tem enter the nucleation rate only in the form of the decay frequency of the nucleus. In order to evaluate the nucleation rate in the $m$ oderately dam ped regim ewe therefore have to include the conservative, precessional part of the dynam ics for the evaluation of the decay frequency + . In the lim its of sm all and large nuclei this decay frequency can again be expressed in closed analyticalform thus enabling us to give exact results of the total prefactor and hence of the total rate. T o the best of $m y$ know ledge, this provides the rst application of Langer's general theoryt of m oderate friction to a system $w$ ith in nitely $m$ any degree of freedom $s$.

In a rst part we discuss the escape frequency + . W e obtain exact expressions in the $\lim$ its R ! 1 and Q 12 ! 1 as well as an approxim ate form ula which expresses + by $\mathrm{E}_{0}^{\mathrm{s}^{\prime}}$. These results allow an exact evaluation of the nucleation rate in the $\lim$ its $R!0$ and R ! 1 .

## A. E scape F requen cy

T he dynam ically unstable m ode ( ${ }^{\prime}+; \mathrm{p}_{+}$) of the nucleus is the solution of the (non H erm itian) coupled eigenvalue problem 32). Before tuming to a quantitative analysis we give a qualitative discussion of the
parity and relative sign of the functions' + , $\mathrm{p}_{+}$. Both functions are nodeless and sym $m$ etric in x w th opposite relative sign as $m$ ay be seen from the follow ing plausibility argum ents: For ! 1 we know from 5.1) that the dynam ical unstable $m$ ode coincides $w$ th the ground state of $\mathrm{H}^{\mathrm{s}^{\prime}}$, i.e. $\left({ }^{\prime}+; \mathrm{p}_{+}\right) /\left(\begin{array}{c}s^{\prime} \\ 0\end{array} ; 0\right)$, and therefore ${ }^{\prime}$ + is a sym $m$ etric nodeless function in $x$. For nite values of there $w$ ill be a nonzero $p_{+}$-com ponent. Since the nucleus represents an untw isted B loch wallpair (cf. (I, 3.11 )), the instability represents a con uence or a separation of the two dom ain walls which is associated with a monotonical increase or decrease of the angle. Hence $'$ + is a sym $m$ etric nodeless function in x . To com m ent on $p_{+}$, we have to recall that a m otion of the dom ain wall is only possible if the structure exhibits an out of easy-plane com ponent 45 . In order for the dom ain walls to $m$ ove in opposite directions, the out ofeasy-plane com ponent $m$ ust have the sam e sign at the center of the two oppositely tw isted kinks and due to the gyroscopic nature of the equations of $m$ otion, $\mathrm{p}_{+}$and ${ }^{\prime}+\mathrm{m}$ ust have opposite signs.

Therefore we are looking for even-parity nodeless solutions of (3.2) w ith opposite signs. The am biguity in the overall sign of $\left({ }^{r}+; p_{+}\right)$describes the freedom of the nucleus either to collapse or to expand. Inspecting (3.2) we recognize that the eigenvalue problem can be easily solved if ${ }^{\prime}+$ and $p_{+}$are the ground states of $\mathrm{s}^{\mathrm{s}^{\prime}}$ and $\mathrm{H}^{\mathrm{sp}}$ respectively and proportional to each other. This is fulled in two lim iting cases, i) $R$ large and ii) Q ${ }^{1} 21$. i) For large $R$ we have according to (2.19) and (I, 62)

$$
\begin{align*}
& s^{\prime}  \tag{6.1}\\
& 0
\end{align*} \int_{0}^{\operatorname{sp}} / \operatorname{sech}(x=+R)+\operatorname{sech}(x=\quad R):
$$

Inserting ${ }^{\prime}+/ \mathrm{p}_{+} / \mathrm{s}_{0}^{\prime}$ into (3.2) and using that the ground state energy of $H^{s p}$ is given by $E_{0}^{s p} \quad Q^{1}$ we obtain

$$
\begin{equation*}
+=\frac{\left.\frac{2}{2} \mathrm{Q}^{1}+\mathrm{E}_{0}^{\mathrm{s}^{\prime}}\right]}{\left.\overline{\mathrm{r}}^{2} \mathrm{Q}{ }^{1} \quad \mathrm{E}_{0}^{\mathrm{s}^{\prime}}\right]^{2} \quad Q^{1} \mathrm{E}_{0}^{\mathrm{s}^{\prime}} ;} \tag{62}
\end{equation*}
$$

where $E_{0}^{s^{\prime}}, \quad 8 e^{2 R}$ in the lim it $R!1$. The square root in 62) has been retained because the relative m agnitude of the ( sm all) param eters $\mathrm{E}_{0}^{\mathrm{s}^{\prime}}$, , and $\mathrm{Q}{ }^{1}$ has not been speci ed yet. T he corresponding unstable mode is given by

$$
\begin{align*}
& \left(r^{\prime}+p_{+}\right) / \stackrel{h}{\operatorname{sech}(-}\left(-\frac{x}{-}\right)+\operatorname{sech}\left(\begin{array}{l}
\text { x } \\
- \\
)^{i}
\end{array}\right. \\
& \text { (1; } Q\left[++E_{0}^{s^{\prime}}\right] \text { ): } \tag{6,3}
\end{align*}
$$

The plus sign of the square rooot is chosen in order to reproduce the correct asym ptotic behavior (5.2) for large
. N ote that Eq. 6.3) agrees w ith the statem ents $m$ ade above: $T$ he functions $p_{+} ;^{\prime}+$ are sym $m$ etric and nodeless while the ratio $\mathrm{p}_{+}=^{\prime}+$ is alw ays negative and vanishes for
! 1 . For ! 0 we have $p_{+}=_{+}^{\prime}=P \overline{E_{0}^{s^{\prime}}(R) j}$.
ii) ForQ ${ }^{1}{ }^{2} \quad 1$ we have $H^{s p} p_{+}=Q{ }^{1} p_{+}+O\left({ }^{2}\right)$. Thus the rst Eq. of (3.2) can be solved for $p_{+}$and
after insertion into the second eq. of 3.2), the follow ing eigenvalue problem is obtained:

$$
\begin{equation*}
\mathrm{H}^{\mathrm{s}^{\prime}}+=+{\frac{+Q+}{1+2^{2}++Q}}^{\prime}+; \tag{6.4}
\end{equation*}
$$

The solution of this equation is known, i.e. ${ }^{\prime}+/ \begin{aligned} & s^{\prime} \\ & 0,\end{aligned}$ and hence the coe cient of ${ }^{\prime}+$ on the r.h.s. equals $\mathrm{E}_{0}^{{ }^{\mathrm{s}^{\prime}}}$. Solving for + we recover the expressions 6.2) for + and (6.3) for $p_{+}=^{\prime}+$ but $w$ th $\mathrm{E}_{0}^{\mathrm{s}^{\prime}}(\mathrm{R})$ now evaluated for arbitrary values of $R$. This is a rem arkable result as it dem onstrates the validity of 6.2), (6.3) in the opposite $\lim$ its Q ${ }^{1}{ }^{2} \quad 1, R \quad$ 1. N ote that for large Q ${ }^{1}$, 62) and (6.3) hold for all values of $R$. In the particular case of sm all $R\left(\begin{array}{ll}2 & 1) \text { we can insert the small } R\end{array}\right.$ approxim ation $E^{s^{\prime}}=3 R^{2}+O\left(R^{4}\right)$ into 6.2) to obtain

$$
\begin{align*}
+= & \frac{\left.-Q^{1} 3 R^{2}\right]+}{\bar{r}^{2}} \frac{\left.Q^{2}+6 Q^{1} R^{2}\right]+3 Q^{1} R^{2}}{} \tag{6.5}
\end{align*}
$$

The unstable $m$ ode is then given by

$$
\begin{equation*}
\left(r_{+} ; \mathrm{p}_{+}\right) / \operatorname{sech}^{2}\left(\frac{\mathrm{x}}{-}\right)\left(1 ; \quad Q\left(+\quad 3 \mathrm{R}^{2}\right)\right): \tag{6.6}
\end{equation*}
$$

The validity of the expression (62) in the opposite lim its $R$ ! $0 ; 1 \mathrm{~m}$ ight hint to a m ore extended validity. In order to investigate + for interm ediate values of $R$ at arbitrary Q ${ }^{1}$ we have to resort to num ericalm ethods. It tums out that the direct integration of 32, yields rather inaccurate results (errors of $10 \%$ ). C onsiderable im provem ent has been achieved by converting (3.2) into tw o decoupled $4^{\text {th }}$ order di erential equations in each of the variables ' + ; $p_{+}$. A s is seen from $F$ ig. 4, Eq. 62) provides an excellent approxim ation to these num erical results.

## B. N ucleation R ates

W e are now in a position to give the results for the prefactor for $m$ oderate dam ping. Results in closed form are obtained in the lim its R ! 0 and $R$ ! 1 . For Q ${ }^{1} 2$ ! 1 the prefactor can be expressed in term $s$ of the negative eigenvalue $\mathrm{E}_{0}^{\mathrm{s}^{\prime}}$ which for arbitrary values of $R$ has to be evaluated num erically.
i) For large R , we can com bine (4.59), 4.29) and (62) w th $\mathrm{E}_{0}^{\mathrm{s}^{\prime}}=8 \mathrm{e}^{2 \mathrm{R}}$ to obtain

$$
\begin{aligned}
= & L \frac{p}{A} \frac{2}{3=2}\left[\bar{Q}+P \frac{p}{1+Q}\right]^{2} e^{R} \frac{n}{2}\left(Q^{1}\right) \\
& \left.+e^{2 R}\right) \\
& \overline{2}^{2}\left[Q^{2}+16 Q^{1} e^{2 R}\right]+8 Q^{1} e^{2 R}:(6.7)
\end{aligned}
$$

T he square root has been retained since the relative order ofthe sm allparam eters ande ${ }^{2 R}$ has notbeen speci ed
yet. H ow ever, in an expansion of the square root only leading term $s$ in $e^{2 R}$ should be taken into account.
ii) For Q ${ }^{12}$ ! 1 , the results 4.58) and 4.31) yield

$$
\begin{equation*}
=\quad+L^{\mathrm{P}} \overline{\mathrm{~A}} \frac{4}{3=2} \tanh ^{3=2} R \sinh R \tag{6.8}
\end{equation*}
$$

with + given by 62). For sm all R , this result reduces $w$ ith 6.5) to

$$
\begin{align*}
& \text { ( } \\
& =L \begin{array}{l}
P \\
A \\
\frac{4}{3=2} R^{5=2} \quad\left(Q^{1} \quad 3 R^{2}\right)
\end{array} \\
& \left.\left.+\overline{2}^{2} Q^{2}+6 Q^{1} R^{2}\right]+3 Q^{1} R^{2}\right): \tag{6.9}
\end{align*}
$$

A lso here, the square root has been retained since we did not specify the relative $m$ agnitude of the $s m$ all param $e^{-}$ ters and R. However, we have to keep in $m$ ind that upon expansion of the square root only term $s$ in leading order in R have to be kept in order to be consistent with the derivation of the determ inant of $p$ - uctuations. For sm all dam ping constants $\bar{Q} R$, Eq. 6.9) reduces to

$$
\begin{equation*}
=L \mathrm{p} \bar{A}_{\frac{4^{p}}{3=2} p}^{Q^{1} R^{7=2}}: \tag{6.10}
\end{equation*}
$$

This lim it is realized in typical experim ental situations. For ${ }^{\rho} \bar{Q} R \quad$ we obtain

$$
\begin{equation*}
=L \mathrm{P} \frac{1}{A} \frac{12}{3=2} \quad+\frac{1}{-} R^{9=2}: \tag{6.11}
\end{equation*}
$$

For large values of , Eq. 6.11) m erges into the prefactor for the overdam ped regim e 5.5).
$T$ he above results for the prefactor are sum $m$ arized in table I. In Fig. 5, num erical results for the prefactor are shown for arbitrary values ofR. Theprefactor ism axim al for R ' 1 and decreases as the extemal eld approaches the anisotropy eld, i.e h! 1, or as the eld approaches zero. O ne clearly recognizes that is independent of the hard-axis anisotropy $Q^{1}$ and the dam ping constant for $s m$ all and interm ediate values of $R$, respectively as predicted by 6.11), 6.19).
$T$ he total rate form agnetization reversal is then given by (3.11) and experim ental consequences of this result shall be discussed in section VIII. A detailed discussion of experim entalim plications of these results $m$ ay also be found in Ref. 42.

> VII. RELAT IO N TO THE DOUBLE SINE-GORDON SYSTEM

In this section it is show $n$ that the results of the previous sections allow us to calculate the nucleation rate of kink-antikink pairs of the double sine-G ordon $m$ odel for $m$ oderate to large friction. Second, we shall see that
in the lim it Q ${ }^{1} 2$ ! 1 (i.e., large hard-axis anisotropy and/or elds close to the anisotropy eld), $m$ agnetization reversal rates becom e equivalent to the creation rates of kink-antikink pairs in the double sine-G ordon $m$ odel.
$D$ iscarding noise term $s$ for the $m$ om ent, we consider the dynam ics of a eld variable ( $x$; $t$ ) which is govemed by the dam ped double sine-G ordon equation

$$
\begin{equation*}
Q @_{t}^{2}+\varrho_{t}=\underline{E_{d S G}} ; \tag{7.1}
\end{equation*}
$$

w ith the energy

$$
\mathrm{E}_{\mathrm{dSG}}=\mathrm{Z}_{\mathrm{L}=2}^{\mathrm{L}=2} \mathrm{dx} \frac{1}{2}\left(@_{\mathrm{x}}\right)^{2}+\frac{1}{2} \sin ^{2} \quad \mathrm{~h} \cos \quad:(72)
$$

The constant Q plays the role of a mass and is a dam ping constant. In the overdam ped lim it, the inertia term $Q @_{t}^{2}$ in (7.1) can be neglected and the dynam ics is purely determ ined by the dam ping term. $N$ ote that (72) is equivalent to the energy density 2.5) restricted to the easy-plane $==2$. Therefore, Eq. (7.) exhibits the sam e saddle point solution s 2.9) as the full $m$ agnetic system. The corresponding barrier energy betw een the m etastable state $=$ and the absolute m in im um $=0$ is given by $E_{s}$ 2.15). Expanding $(x ; t)=s(x)+{ }^{\prime}(x ; t)$ and linearizing the equation of $m$ otion 7.1) around the saddle point yields

$$
\begin{equation*}
\mathrm{Q} \varrho_{\mathrm{t}}^{2 \prime}+\varrho_{\mathrm{t}}{ }^{\prime}+\mathrm{H}^{\mathrm{s}^{\prime} \prime}=0 ; \tag{7.3}
\end{equation*}
$$

where $\mathrm{H}^{\mathrm{s}^{\prime}}$ is given by 2.13). A description of the stochastic dynam ics in the vicinity of the saddle is obtained by adding the stochastic force $(x ; t)$ to the r.h.s. of 7.3). w ith the noise correlation $h\left(x^{0} ; t^{0}\right)(x ; t) i=$ ( $2={ }^{\sim}$ ) ( $\left.x \quad \&\right)$ (t $\left.\ell\right)$. The corresponding Fokker$P$ lanck equation takes the form of 3.8) if we identify $\sim=A, M_{11}=0, M_{12}=M_{21}=1, M_{22}=$ and $H=\left(H^{s^{\prime}} ; Q^{1}\right)$.
$T$ he transition rate from the $m$ etastable state (neglecting transitions that lead back from the $m$ etastable state over the barrier to the initial state) can then be calculated as in the appendix w ith the result:
where $E_{s}$ is given by 2.15). In 7.4) a factor of 2 has been included due to the existence oftw o equivalent saddle points $s$, and the ratio of the determ inants has been calculated in 4.55). ${ }_{+}>0$ is the nucleus decay frequency which is obtained by insertion of ${ }^{\prime}=e^{\sim}+t r+$ into 7.3),

$$
\begin{equation*}
\sim_{+}=\frac{Q^{1}}{2}\left[1+\frac{q}{1+4 Q E_{0}^{s^{\prime}} \ddagger}{ }^{2}\right] \tag{7.5}
\end{equation*}
$$

w ith $\mathrm{E}^{\mathrm{s}^{\prime}}$ the (negative) ground state energy of $\mathrm{H}^{\mathrm{s}^{\prime}}$. Eqns 7.4), 7.5) constitute the creation rate of kinkantikink pairs in the moderately dam ped double sineG ordon system.

It $m$ ay now be veri ed that the $m$ agnetization reversal rate (3.11), 3.12) $w$ th (4.31) is equivalent to the result 7.4 ) in the $\lim$ it $Q^{1}{ }^{1}$ ! 1 , provided that the tim e scale in 7.1)-7.4) is chosen as t] $=\mathrm{M}_{0}=\left(2 \mathrm{~K}_{\mathrm{e}}\right)$ while energies and lengths are chosen as in (2.4). Taking the $\lim$ 五 $Q \mathrm{~F}_{0}^{\mathrm{s}^{\prime}} \mathrm{F}^{2}$ ! 0 in (62) and 7.5) we obtain $+=\left(+{ }^{1}\right) \mathcal{E}_{0}^{s^{\prime}}$ j and $\sim_{+}^{\sim}=\mathcal{E}_{0}^{s^{\prime}} \dot{F}$, respectively. Reinstating units, the equivalence of and dSg is $m$ m ediately veri ed.

V III. D ISC U SS IO N

In the previous sections we have investigated the rate of $m$ agnetization reversal in an e ectively 1D ferrom agnet which describes $m$ agnetization con gurations in an ideal elongated particle of a sm all constant cross section A. The experim entally $m$ ost im portant conclusion is the existence of a saddle point structure which is bcalized along the sam ple. Unlike the $N$ eelB rown theory ${ }^{2}$ w hich leads to a barrier energy $V K_{e}(1 \quad h)^{2}$ proportional to the particle volum e $V$, the present theory leads to an energy barrier $A E_{s}$ that is proportional to the sam ple cross section and to the dom ain wall energy (after reinstating the units 2.4)). For su ciently elongated particles the energy of the nonuniform barrier is thus always lower than that of the uniform one and thus the present theory predicts much low er coercivities than the N eelB rown theory. To illustrate this, we consider the follow ing typicalm aterial param eters of particles such as $\mathrm{CrO}_{2}: \mathrm{A}=5 \quad 10^{7} \mathrm{erg} / \mathrm{cm}, \mathrm{K}_{\mathrm{e}}=7 \quad \mathrm{I}^{50}$, erg $=\mathrm{cm}^{3}$, $M_{0}=4800 \mathrm{e}, \quad=1: 5 \quad 10 \mathrm{e}^{1} \mathrm{~s}^{1}$. For $\mathrm{T}=300 \mathrm{~K}$, $Q^{1}=0: 2,=0: 05$, the num erically evaluated sw itching rate (3.11), 4.58) is show $n$ in $F$ ig. (G as a function of the extemal eld for various particle diam eters but for a xed aspect ratio of 15:1. The dotted lines represent the prediction 28 of the N eel-B rown theory, while $H_{\text {ext }} \mathrm{M}_{0}=\left(2 \mathrm{~K}_{\mathrm{e}}\right)=1$ is the StonerW ohlfahrth value of the nucleation eld. O ne clearly recognizes the dram atic coercivity reduction for particles $w$ ith sm all diam eters. $N$ ote that the $s w i t c h i n g$ rate at a given eld predicted by the present theory exceeds that of the $N$ eelB row $n$ theory by $m$ ore than 10 orders ofm agnitude. C onversely, the coercivity of a particle ofdiam eter 100A exhibits a coercivity which (depending on the $m$ easurem ent tim e) is about one third of the Stoner-W ohlfahrth value. Since the barrier energy $A E_{s}$ is independent of the particle length, the present theory predicts the coercivity to becom e independent of the particle length for su ciently long particles. $T$ his is in contrast to the theory of $N$ eeland $B$ row $n$ which predicts a suppression of them ale ects in the particle volume.

Experim ents investigating the coercivity of a single elongated particle indeed show a signi cant coercivity reduction from the Stoner-W ohlfahrth value for elds along the particle. T hese experim ents have also show $n$ an asym $m$ etry in the angular dependence of the coercivity,
the coercivity reduction being $m$ ore pronounced for extemal eldsalong the particle axis than for elds directed perpendicularly to the sam ple. B oth of these ndings are in qualitative agreem ent ${ }^{42} \mathrm{w}$ ith the present theory. A quantitative com parison betw een theory and experi$m$ ents is di cult for the presently available experim ental data since the particles are irregularly shaped and often contain voids. Experim ents on particles $w$ th a m ore perfect $m$ onphology such as CrO 2 or data of particles $w$ ith various aspect ratios and diam eters w ould clearly be desirable to further clarify the $m$ echanism of them ally activated $m$ agnetization reversal.

Let us now recall the various assum ptions that have been $m$ ade in the present theory:

T he cross-sectional area has been considered constant throughout the particle. This assum ption leads to a continuous degeneracy of the solution $s w$ th respect to translations. In the case of a varying cross sectionalarea, the present treatm ent w ill still.be approxim ately correct if the variations have a much shorter wavelength than the characteristic length scale of the nucleus. H ow ever, if the cross sectional area varies substantially, the saddle point energy will depend on the coordinate $x_{0}$ in 2.9) and hence a whole class of energetically alm ost degenerate saddle points em erge. Such an extension of the present theory would predict that one single particle behaves as if there would be a distribution of saddle point energies. Experim ental results ${ }^{4} 4$ indeed show deviations from an A rrienius law involving a single energy barrier. $T$ hey exhibit a decay of the $m$ agnetic $m$ om ent of a single particle that is proportional to $\ln$ t over severaldecades in $t$, a fact that is usually attributed to a distribution ofenergy barriers. Such a behavior cannot be reconciled with the sim ple $N$ eel $B$ row $n$ picture which predicts a unique energy barrier for a single particle.

In addition, we have focussed on nucleation in the interior of the particle but w e have neglected e ects occurring at the particle ends:

Since the nucleus s describes am agnetization con guration $m$ erging asym ptotically into the $m$ etastable state, the present nucleus $m$ ay also be used to describe a situation where the $m$ agnetization is pinned at the sam ple ends. In order for the present theory to hold, how ever, the pinning energy has to be su ciently sm all that it can be overcom e by the tw o dom ain walls propagating from the nucleation location to the sam ple ends.

In the opposite case of free boundary conditions, i.e. $M^{0}(\quad L=2)=0$, there exists also the possibility that only one dom ain wall is nucleated at one sample end. This case can also be related to the present theory. In the ideal situation of a sam ple of constant cross section and an e ective easy-axis anisotropy that extends to the sam ple end (at least w ithin a distance sm aller than the dom ain wall width), the saddle point structure s restricted to the interval $1<x<0$ represents a dom ain wallwhich is nucleated at the sample end $x=0$. C onsequently the corresponding energy is half of the nucleus energy $A E_{s}$.

The theory as outlined in the appendix applies to the
regim e ofm oderate to large friction. Since, how ever, the dam ping constant in $m$ agnetic system $s$ is quite $s m$ all, som e estim ates of the applicability range of the present theory are presented in the follow ing.

## A. V alid ity of the $T$ heory

T he principalexistence of a low er lim it of the dam ping constant for the present theory $m$ ay be seen as follow $s$. For $=0$, the linearized equations 3.1) do not describe the decay of the nucleus tow ards the stable state but rather a purely precessionalm otion which conserves the energy. Therefore, the corresponding decay frequency + is com pletely irrelevant for the nucleation rate for ! 0 .

For very sm all values of the dam ping constant, a com pletely di erent $m$ ethodology would have to be applied, since the nucleation does no longer correspond to a di usion in con guration space but rather in energy space. Since the tim e evolution of the nucleus for extrem ely spall is expected to exhibit a \breathing" oscillation 45 , a derivation of the corresponding FokkerPlanck equation would be an extrem ly di cult task. H ow ever, we shall see that the applicability range of the present theory extends to rather sm all values of even for sm all nuclei and sm all cross sectional areas of the sam ple. T herefore we do not consider the underdam ped theory any further.

A criterion for the crossoverbetw een the present theory and energy di usion has been given by Landauer and Sw anson ( $R$ ef. 14 and in Ref. 16 (see also Ref. 39)). The $m$ oderately dam ped theory $m$ ay be applied if the energy loss during an (approxim ate) period of the $m$ otion near the saddle point exceeds $k_{B} T$.

U sing the equations of m otion (22) we obtain for the energy loss rate per area

$$
\begin{equation*}
\frac{\mathrm{dE}}{\mathrm{dt}}=\quad \mathrm{Z} \quad \mathrm{dx}\left(@_{\mathrm{t}} \mathrm{~m}\right)^{2} \text {; } \tag{8.1}
\end{equation*}
$$

where $\mathrm{m} \quad \mathrm{M}=\mathrm{M}_{0}$. Since 8.1) m ay also be expressed by spatial instead of tem poralderivatives it is clear that the energy loss will be sm allest for sm all nuclei. In this lim it we may em ploy the spin wave approxim ation $\mathrm{m}_{\mathrm{y}} ; \mathrm{m}_{\mathrm{z}} \quad 1, \mathrm{~m}_{\mathrm{x}}=1+0\left(\mathrm{~m}_{\mathrm{x}}^{2}\right)$. The energy loss during one approxim ate period then takes the follow ing form

$$
\begin{equation*}
A E=A_{0}^{Z \frac{2}{!}} d t \quad d x\left(@_{t} m_{y}\right)^{2}+\left(a_{t} m_{z}\right)^{2} \tag{8.2}
\end{equation*}
$$

where $\frac{2}{1}$ is the precession period. The r.h.s. of 8.2) is now evaluated approxim ately. First, we are only interested in leading order in and thus we m ay use the conservative equations ofm otion for the evaluation of the integrand in (82). Second we discard any breathing effects and neglect the exchange coupling of the $m$ agnetic m om ents such that the precession am plitude is given by the spatial distribution of the nucleus. Linearization of
the equations ofm otion for $=0, @_{\mathrm{t}} \mathrm{m}=\mathrm{m} \quad\left(\mathrm{E}_{0}=@ \mathrm{~m}\right)$, $w$ th $E_{0}$ the energy (2.1) $w$ thout exchange, then leads to

$$
\begin{align*}
& @_{\mathrm{t}} \mathrm{~m}_{\mathrm{y}}=\left(\begin{array}{ll}
1 & \mathrm{~h}+\mathrm{Q}^{1}
\end{array}\right) \mathrm{m}_{\mathrm{z}} \\
& @_{t} m_{z}=(1 \quad h) m_{y}: \tag{3.3}
\end{align*}
$$

They describe an elliptical precession $m=m_{z}^{0} \sin !t_{1}$ $m_{y}=\quad m_{y}^{0} \cos !t w$ ith $m_{z}^{0}=m_{y}^{0}={ }^{p} \bar{h}=\overline{h+Q^{1}}$ and $!=P \frac{h\left(1 \quad h+Q^{1}\right)}{(1)}$. Inserting this into 8.2) we obtain
$A E=A \frac{2}{!}^{Z} d x\left(m_{Y}^{0}\right)^{2}(1 \quad h)\left(1 \quad h+\frac{Q^{1}}{2}\right):$

N ow, for sm allnuclei, we have $h=\operatorname{sech}^{2} R$ ' $1 R^{2}$. The precession is assum ed to cover the nucleus structure and therefore we have $\mathrm{m}_{\mathrm{y}}^{0}=2 \sinh R \cosh (\mathrm{x}=)=\left(\sinh ^{2} \mathrm{R}+\right.$ $\cosh ^{2}(x=1)$. Inserting this in (8.4) and perform ing the integration the validity condition $A \mathrm{E}>\mathrm{k}_{\mathrm{B}} \mathrm{T}$ takes the follow ing form in leading order $R$

$$
\begin{equation*}
\mathrm{E}=8 \mathrm{Q}{ }^{1=\mathrm{z} 2} \mathrm{~A} \quad \mathrm{R}^{2}>1: \tag{8.5}
\end{equation*}
$$

For typical values of the constants as given above and $Q^{1}=0.2$ we obtain the condition $R^{2} a 71^{10}>1$ where $a$ is the cross section area $m$ easured in $\mathrm{cm}^{2}$. The $\lim$ it is reached fore.g. $=0: 05, R=0: 4(h=0: 84)$ at particle diam eters 70A. N ote that due to the neglection of the breathing contribution to the energy loss this represents a lower lim it for and therefore the theory may be applied even for sm aller values of or sam plessm aller than indicated above.

## IX. ACKNOW LEDGEMENTS

I kindly acknow ledge illum inating discussions with W . B altensperger, S. Skourtis, H. Suhl and P. Talkner. This w ork w as supported by the Sw iss N ational Science Foundation and by O NR-G rant N 00014-90-J-1202.

## APPEND IX

In this appendix we present a derivation of the expression for the nucleation rate starting from the FokkerP lanck equation 3.8) near the saddle point. Since the determ inistic part of the dissipative linearized equations (3.2) constitutes a non Hem itian eigenvalue problem, there is no known set of eigenfunctions to expand in and therefore traditional form ulations which are based on an expansion into $m$ ode am plitudes cannot be applied im $m$ ediately. In the sequel we shall show, how ever, that the $w$ ithin a functional form ulation, the derivation of the nucleation rate can be carried out in close analogy to the $m$ ethods of $K$ ram ers ${ }^{13}$ and its extension to $m$ any degrees of freedom by Lange $\|^{(b)}$. In the lim it of large friction the
result reduces to the theorie ${ }^{14} 4$ of $B$ rinkm an, LandauerSw anson and Langer.

The pasic principles of the $m$ ethod go back to $K$ ram erd 3 . W e calculate the stationary ux of a nonequilibrium distribution across a surface transverse to the unstable direction at the saddle point. A main di erence to nite dim ensional problem $s$ is the existence of the G oldstone $m$ ode $w$ th zero energy which re ects the continuous degeneracy of the nucleus $s$ w th respect to rigid translations.

O ur goal is the construction of a stationary nonequilibrium probability density obeying the boundary conditions \%' 1 near the $m$ etastable state and \%' 0 beyond the saddle point. To this end we factorize the desired probability distribution as follow s:

$$
\begin{equation*}
\%=\frac{\circ}{o_{e q} F}: \tag{A1}
\end{equation*}
$$

The key assum ption is now to let $F$ be a function of one coordinate $u$ only. $F$ is such that \% is a nom alizable function. In the vicinity of the saddle point, the coordinate $u$ is a linear functional in

$$
u={ }^{Z}{ }^{Z}{\underset{j}{X}}_{U_{j}(x)_{j}(x) ;}
$$

w ith $\left(\mathrm{U}_{1} ; \mathrm{U}_{2}\right)=\left(\mathrm{U}^{\prime} ; \mathrm{U}^{\mathrm{P}}\right)$. A fter insertion of A 1$) \mathrm{w}$ ith (A2) into (3.6) and using the stationarity of \% we obtain

$$
\begin{align*}
& Z \quad X x_{i j}^{X} M_{i j} \quad H_{i} i(x) U_{j}(x) \frac{d F}{d u} \\
& \quad+\frac{1}{A} U_{i}(x) U_{j}(x) \frac{d^{2} F}{d u^{2}}=0: \tag{A3}
\end{align*}
$$

In order for A 3) to becom e a proper di erentialequation in $u$ alone we m ust have

$$
\int_{d x}^{Z} M_{i j} H_{i j i}(x) U_{j}(x)=u ;
$$

$$
\begin{equation*}
\frac{1}{A}{ }^{Z} d x{ }_{i j}^{X} M_{i j} U_{i}(x) U_{j}(x)= \tag{A5}
\end{equation*}
$$

Where , are peal constants. Since from (3.5), ${ }_{i j} M_{i j} U_{i} U_{j}={ }_{i} U_{i}^{2}$, the condition A5) am ounts to a norm alization of the $U_{i}$ and we have $>0 . U$ sing A ) and A5), Eq A reduces to the sam e di erential equation as in the case 3 of one degree of freedom:

$$
\begin{equation*}
u \frac{d F}{d u}+\frac{d^{2} F}{d u^{2}}=0: \tag{A6}
\end{equation*}
$$

which is integrated with the boundary conditions $F(1)=1, F(1)=0$, i.e. the vicinity of the $m$ etastable state ( $u$ ! 1 ) is characterized by them al equilibrium while the probability distribution vanishes
beyond the sadlle point (u! 1 ). Since \% has to be nor$m$ alizable we m ust have $<0$ and hence $<0$. $F$ is then given by

Inserting (A.7) and A5) into (3.9) we obtain for the current near the saddle point:

$$
\begin{equation*}
J_{i}(x)=\frac{1}{A} \frac{1}{2 j j} \exp \quad \frac{u^{2}}{2 j j}{ }^{\circ}{ }^{o_{e q}}{ }_{j}^{X} M_{i j} U_{j}(x): \tag{A8}
\end{equation*}
$$

W e now retum to the evaluation of . Equation A. is
ful led if

$$
\mathrm{X}_{\mathrm{j}} \mathrm{M}_{\mathrm{ij}} \mathrm{H}_{\mathrm{i}} \mathrm{U}_{\mathrm{j}}=\mathrm{U}_{\mathrm{i}}:
$$

N ote that this implies that $\mathrm{U}^{\prime}(\mathrm{x})$ has no com ponent $a_{\mathrm{P}} \mathrm{jong}$ the zero frequency m ode $\operatorname{since}\left(\begin{array}{c}s^{\prime} \\ 1\end{array} ; \mathrm{U}^{\prime}\right)=1$
$\mathrm{M},_{j} \quad\left(\mathrm{~F}^{\prime} \begin{array}{c}\mathrm{s}^{\prime} \\ 1\end{array} ; \mathrm{U}^{\prime}\right)=0$. This is physically plausible since the dynam ical instability of $s$ is only associated w ith a shrinking or expansion of the nucleus but not w ith a pure translation of the nucleus as described by $\begin{gathered}s^{\prime} \\ 1\end{gathered}(x)$. B ecause $H^{s p}$ is a positive operator there is no restriction on the functions $U^{p}(x)$. Therefore (Ag) can be inverted to give

$$
\begin{equation*}
{ }_{j}^{X} M_{i j} U_{j}=H_{i}{ }^{1} U_{i} ; \tag{A10}
\end{equation*}
$$

where $\left(H^{s^{\prime}}\right)^{1}$ acts only on the subspace $f f j\left(f ; \begin{array}{c}s^{\prime} \\ 1\end{array}\right)=$ 0 g . E qn A1d) and hence A S) are solved by putting $\mathrm{U}_{\mathrm{i}}=$ $\mathrm{H}_{\mathrm{i}}{ }_{i}^{+}$where $+=\left(r_{+} ; \mathrm{p}_{+}\right)$is the dynam ical unstable m ode obeying (3.2). Therefore we have

$$
\begin{equation*}
=\quad+<0: \tag{A11}
\end{equation*}
$$

The escape rate is now obtained by integrating the ux transverse to the unstable direction, e.g. over the $m$ anifold $u=0$ :
where we have used A 8) and + is determ ined by the eigenvalue equation (32). The constant will cancel in the nal result as we shall see below. \%eq has to be evaluated on the hyperplane $u=0$ in the vicinity of the saddle point. A ccording to 3.10) it is given by $\%_{e q}=\operatorname{expf} \quad A F_{s}^{(2)} g=Z \mathrm{w}$ th. Z is determ ined by the norm alization of $\%_{e q}$ in the vicinity of the $m$ etastable
state. U pon insertion of 3.10) and using the Fourier representation of the -function, eq. (A 12) reads

$$
\begin{align*}
& =+\frac{\mathrm{j}}{\frac{j}{2} \mathrm{je}^{A E_{\mathrm{s}}}}{ }_{Z}^{Z}{\frac{d q}{}{ }^{Z}}_{D^{\prime}}^{D^{\prime} D p \exp f i q u g} \\
& \exp \\
& \left.A \frac{1}{5}_{2}^{Z} d x^{\prime} H^{s^{\prime}}+\frac{1}{2}^{Z} d x p H^{s p} p\right]: \tag{A13}
\end{align*}
$$

For the evaluation of the functional integrals we use the self adjointness of $\mathrm{H}^{\mathrm{s}^{\prime}}$ and $\mathrm{H}^{\mathrm{sp}}$ acting on functions w th periodic boundary conditions on [ $\frac{\mathrm{L}}{2} ; \frac{\mathrm{L}}{2}$ ]. Therefore they have an orthogonal and com plete set of eigenfunctions $s^{\prime}$, sp $w$ ith $H^{s^{\prime}} s^{\prime}=E^{s^{\prime}} s^{\prime}, H^{s p} s p=E^{s p} s p$, where ; denote the bound states ; $=0 ; 1$; (2) and scattering states ; $=k$ as well. Therefore we can expand

$$
\begin{align*}
& f(x)={ }^{X}, \quad s^{\prime}(x) ;  \tag{A14}\\
& p(x)={ }^{X} \quad p^{s p}(x) ; \tag{A15}
\end{align*}
$$

where $k={ }_{k}$, and ' ; p are com plex expansion coe cients. Since' and p are real we have ${ }_{\mathrm{P}}{ }^{\prime}=$ ' and $p=p$. Expanding sim ilarly $u=U^{\prime}, \quad+$ $U^{p} p$ we obtain

$$
\begin{aligned}
& =+\frac{\mathrm{j}}{2} \frac{j e e^{A E_{s}}}{Z} \frac{d q}{2}^{Z} Y d^{Z} Y(p
\end{aligned}
$$

where the prim e on the sum indicates that the integrand is independent of ${ }^{\prime}{ }_{1}$, since $E_{1}^{s^{\prime}}=U_{1}^{\prime}=0$. To sim plify notation we now choose integration $m$ easures ( $d^{\prime}$ ) and (dp ) in A16) and in $Z$ such that e.g.

$$
\begin{align*}
& Z_{1}\left(d p_{0}\right) \exp \quad \frac{A}{2} E_{0}^{s p} p_{0}^{2}=p \frac{1}{E_{0}^{s p}} ; \\
& Z_{1}\left(d p_{k}\right)\left(d p_{k}\right) \operatorname{expf} \quad A E_{k}^{s p} p_{k} p_{k} g=\frac{1}{E_{k}^{s p}}:
\end{align*}
$$

But note that we have to restore $\frac{P}{A=2}$ in the integration over the zero $m$ ode which does not contain a G aussian and note also that the integration $m$ easure in $q$ is the usual one. $W$ e now perform the integrations in ' and $p$ except for the am plitudes of the zero $m$ ode ' ${ }_{1}$ and that of the unstable m ode, ${ }^{\prime} 0$, to obtain:

$$
\begin{aligned}
& ={ }_{Z}^{+} \frac{\mathrm{j}}{2} \frac{j e}{Z} \frac{{ }^{A E_{s}}}{Z} p \frac{1}{\left(\operatorname{det}^{\infty} H^{s^{\prime}}\right.} p \frac{1}{\operatorname{det} H^{s p}} \quad\left(d^{\prime}{ }_{1}\right) \\
& \left.Z \quad d^{\prime}{ }_{0}\right) \frac{d q}{2} \exp \frac{q^{2}}{2 A}\left(X^{\infty} \frac{J^{\prime} \jmath^{2}}{E^{s^{\prime}}}+X \frac{j^{p}{ }^{p}}{E^{s p}}\right)
\end{aligned}
$$

$$
\begin{equation*}
\exp i q U_{0}^{\prime} \prime_{0}+\frac{A}{2} \Xi_{0}^{s^{\prime}} \dot{\jmath}_{0}^{2}: \tag{A18}
\end{equation*}
$$

The expression det $H$ stands for the product of all eigenvalues of $H$. The double prim e on the determ inant and the sum $m$ ation indicates that the term $s=0 ; 1$ corresponding to the unstable m ode and the zero m ode are om itted.
W e now tum to the evaluation of the zero mode. To this end we rem ember that a pure translation of the nucleus can be described by $s(x+d x) \quad s(x)=$
${ }_{s}^{0}(x) d x$ or since ${ }_{1}^{s^{\prime}} / d_{s}=d x$ we can equally well w rite $s(x+d x) \quad s(x)=\quad s_{1}^{\prime}(x) d^{\prime}{ }_{1}$. T his allow sus to replace the integration over the zero $m$ ode by an integration over x . Since $\begin{gathered}\mathrm{s}^{\prime} \\ 1\end{gathered}$ is nom alized to unity and reinstating the integration $m$ easure A 17) of ( $\mathrm{d}_{1}$ ) we have
where

$$
\begin{equation*}
L \quad \mathrm{P} \overline{\mathrm{E}_{\mathrm{s}}} \mathrm{~L}: \tag{A20}
\end{equation*}
$$

H ere we have m ade use of 2.15). A fter perform ing the q-integration A 18) we have to convince ourselves that the rem aining integral converges. $T$ his is ensured by the follow ing relation, which follow s from A5) and A10)

$$
x^{Z} \quad d x U_{i}(x) H_{i}{ }^{1} U_{i}(x)=\quad j \text { j } A<0:
$$

$U$ sing the expansions of $U_{i}$ in term $s$ of the $s^{\prime}$ ip and recalling that $U_{1}^{\prime} \quad 0$ we see that the exponent is in fact negative. $W$ e are now left $w$ th the evaluation of $Z$. Since $\%_{\text {eq }}$ is strongly peaked at the $m$ etastable state we can perform a G aussian approxim ation

$$
\begin{align*}
Z= & D^{\prime} \operatorname{Dpexp} \quad A \frac{1}{2}^{Z} d x^{\prime} H^{m^{\prime}}, \\
& \left.+\frac{1}{2}^{Z} d x p H^{m p} p\right] ; \tag{A22}
\end{align*}
$$

where in contrast to the above' and p now describe uctuations out of the m etastable state. T hey are de ned by $=+{ }^{\prime}$ and $=2$ p, where $j$ j $\mathrm{j} j \mathrm{j}$ 1. This integral is perform ed analogously to the previous one: ' and pm ay be expanded into the ( $p$ lane $w$ ave) eigenstates of $\mathrm{H}^{\mathrm{m}} ; \mathrm{H}^{\mathrm{mp}}$. The integrations then are allG aussian and using the m easure A17) for the integrations, we nally obtain

$$
\begin{equation*}
Z=\frac{1}{\operatorname{det} H^{m}} p \frac{1}{\operatorname{det} \mathrm{H}^{\mathrm{mp}}}: \tag{A23}
\end{equation*}
$$

A fter having perform ed the q-integration we can now carry out the nalG aussian integration over the unstable mode' $0 . U \operatorname{sing}$ A5), A18) leads to the nal result:
where $\operatorname{det}^{0} \mathrm{fH}^{\mathrm{s}^{\prime}}$ jdenotes the product of the m odulus of the eigenvalues $w$ ith om ission of the zero $m$ ode. A part from the dynam icalprefactor the result looks as if we had evaluated in $G$ aussian approxim ation the ratio $Z_{m}=Z_{s}$ of the partition functions at the $m$ etastable state and the saddle point, respectively, w ith the unstable m ode rendered to a stable one. Orloosely speaking, the nucleation rate is proportional to the im aginary part of the ratio $Z_{m}=Z_{s}$. For later reference, we express the result A24) in term $s$ of the eigenvalues $E{ }^{s^{\prime}}{ }^{\mathrm{E}}{ }^{\mathrm{sp}}$ :

$$
\begin{aligned}
& =\frac{+}{2} L{ }^{\mathrm{r}} \frac{\mathrm{~A}}{2} \mathrm{p} \frac{1}{\mathbb{F}_{0}^{S^{\prime}} \mathrm{E}_{2}^{\mathrm{S}^{\prime}} \mathrm{E}_{0}^{\mathrm{SP}} \mathrm{E}_{1}^{\mathrm{Sp}}}
\end{aligned}
$$

where according to $A 20) L=L^{p} E_{s}\left(E_{s}\right.$ is given by 2.15) ) and + is determ ined by (3.2). N ote that in our case of two equivalent saddle points we have to multiply this nal result by a factor of two.

Present A ddress: Physics D epartm ent, Sim on Fraser University, Bumaby B.C. V5A 1S6, Canada; e-mail: hbraun@ sfiu.ca.
${ }^{1}$ see e.g.JF.D illon in M agnetism edited by G R.R ado and H. Suhl (A cadem ic, New York, 1963), vol III, and references therein.
${ }^{2}$ L. N eel, A nn. G eophys. 5, 99 (1949).
${ }^{3}$ W . F. B rown, Phys. Rev.130, 1677, (1963); EEE Trans. M agn. M ag-15, 1196 (1979).
${ }^{4}$ H.B.Braun, Phys. Rev. Lett. 71, 3557 (1993).
${ }^{5}$ J.S. Broz, H B. B raun, O. B rodbeck, W . B alten sperger, and J.S.H elm an, Phys. Rev.Lett. 65, 787, (1990).
${ }^{6}$ H B . B raun, preceding article.
${ }^{7}$ (a) J.S.Langer, A nn.P hys. 41, 108 (1967); (b) A nn.Phys. 54,258 (1969).
${ }^{8}$ D E.M ©C um ber and B.I. H alperin, Phys. Rev. B 1, 1054 (1970)
${ }^{9}$ B.V.Petukhov and V L.Pokrovskii, Sov. Phys. JETP 36, 336 (1973).
${ }^{10}$ M . Buttiker and R. Landauer, Phys. Rev. A 23, 1397 (1980).
${ }^{11}$ G. Barton, J. Phys. A 18, 479 (1985).
${ }^{12}$ R.G.N ew ton, J.M ath. Phys. 24,2152 (1983).
${ }^{13}$ H A. K ram ers, P hysica 7, 284 (1940).
${ }^{14}$ H .C. B rinkm an, P hysica 22, 149 (1956); R . Landauer and JA. Swanson, Phys. Rev. 121 (1961); J.S. Langer, Phys. Rev.Lett. 21, 973 (1968).
${ }^{15}$ S.C olem an Phys.Rev.D 15, 2929 (1977); C .G.C allan and S.Colem an Phys.Rev.D 16, 1762 (1977).
${ }^{16}$ P . H anggi, P . Talkner, and M.B orkovec, Rev. M od. Phys. 62,251 (1990).
${ }^{17}$ A. A haroni, Phys. Rev. 135, A 447 (1964).
${ }^{18}$ I. E isenstein, A . A haroni, P hys. Rev. B 14, 2078 (1976).
${ }^{19}$ M . Enz and R. Schilling, J. Phys. C 19, 1765 (1986).
${ }^{20}$ J.L. van Hemmen and S. Suto, Europhys. Lett. 1, 481 (1986); Physica 141 B , 37 (1986).
${ }^{21}$ E M. C hudnovsky and L. G unther, Phys. Rev.B 37,9455 (1988).
${ }^{22}$ A. G arg and G.H.K im , Phys. Rev. Lett. 63, 2512 (1989)
${ }^{23}$ D D. A w schalom, JF. Sm yth, G . G rinstein, D P. D iV inœenzo, and D. Loss, Phys. Rev. Lett. 68, 3092 (1992).
${ }^{24}$ D. Loss, D P. D iV incenzo, and G. G rinstein, Phys. Rev. Lett. 69, 3232 (1992).
${ }^{25}$ E M. C hudnovsky and L. G unther, Phys. Rev. Lett. 60, 661 (1988).
${ }^{26}$ A. . . C aldeira and K . Furuya, J. P hys. C 21, 1227 (1988).
${ }^{27}$ P .C E. Stam P, E M . C hudnovsky, and B. B arbara, Int. J. M od Phys. B 6, 1355 (1992)
${ }^{28}$ I. K lik and L. G unther, J. Stat. Phys. 60, 473 (1990).
${ }^{29}$ J.S.Broz, Ph.D.Thesis, ETH Zurich (1990); J.S.Broz and W . B altensperger, P hys. Rev.B 45, 7307 (1992).
${ }^{30} \mathrm{~N}$ ote, how ever, that the existence of a saddle point of curling sym $m$ etry does not ensure the possibility of $m$ agnetization reversal with in a continuum $m$ odel. For topological reasons due to the \backbone" at the cylinder axis, the $m$ agnetization along an in nite cylinder cannot be reversed via con gurations that are always tangential to the sam ple surface. W hile this argum ent prohibits the existence of \curling"-nuclei for sm all particles w ith diam eter of less than a dom ain wall width, the discreteness of the lattice reduces the above topological barrier for large sam ple diam eters such that saddle points of \curling sym metry", which are localized along the particle, are indeed expected to be the relevant energy barriers.
${ }^{31}$ A. A haroni and W . B alten sperger, P hys. R ev. B 45, 9842 (1992).
${ }^{32}$ An estim ate for this cross-over to a one-dim ensional behaviourm ay also be obtained by com paring energies of the \curling" (vortex) con guration $\mathrm{M}=\mathrm{M} 0=(\sin ; \cos ; 0)$ and the uniform distribution $M=M_{0} e_{x}$ in an in nite cylinder of radius R and lattioe constant a . For van ish ing hard-axis an isotropy ( $\mathrm{K}_{\mathrm{h}}=0$ ), the form er con guration has exchange energy $2 \mathrm{~A} \ln (\mathrm{R}=\mathrm{a})$ but the corresponding dem agnetizing eld (cf. ( $I, 2.3$ )) is zero due to the absence of $m$ agnetic poles. On the other hand, the uniform con $g$ uration has vanishing exchange energy but dem agnetizing energy ${ }^{2} R^{2} M_{0}$ due to surface poles. The uniform con $g$ uration is therefore energetically favorable for su ciently $s m$ all radii such that $R^{2} \ln (R=a)>\quad M_{0}^{2}=(2 A)$.
${ }^{33}$ F H. Leeuw, R .van den D oel, and U .Enz, Rep.Prog. Phys. 43, 690 (1980).
${ }^{34}$ L. S. Schulm an, Techniques and A pplications of P ath Integration, W iley, New York (1981).
${ }^{35}$ R. R a jaram an, Solitons and Instantons, N orth H olland, Am sterdam (1982)
${ }^{36} \mathrm{~N}$ ote that Ref. 11 deals w ith zero boundary conditions, i.e. $\quad(\mathrm{L}=2)=(\mathrm{L}=2)=0$ which leads to a shift of the spectrum ofeven eigenfunctions by $k==L$ com pared to periodic boundary conditions. The spectrum of odd parity
eigenfunctions is identical for periodic and zero boundary conditions.
${ }^{37}$ A zero energy resonance occurs if the Jost function for even or odd parity is zero for $\mathrm{k}=0$.
${ }^{38} \mathrm{~J}$. Z inn-Justin, Q uantum F ield T heory and C ritical P henom ena, C larendon P ress, $O$ xford (1993), ch. 42.
${ }^{39}$ P. Talkner and H B.B raun, J. C hem .P hys.88, 7537 (1988).
${ }^{40}$ The functions ${ }_{1}^{s^{\prime}},{ }_{1}^{s^{\prime}}$ should be replaced by ${ }_{0}^{\text {sp }}{ }_{0},{ }_{0}^{\text {sp }}$ respectively. H ow ever, ${ }_{0}^{\text {sp }}$ given by 4.41) is now a sym $m$ etric function while $\int_{0}^{\mathrm{sp}}$ an antisym m etric function.
${ }^{41} \mathrm{~T}$ his statem ent is true in the m oderate to strong dam p ing regim e which is considered in the present paper. $W$ e do not consider here the underdam ped regim e which would require a com pletely di erent approach by constructing a Fokker-P lanck equation in the energy variable. For a criterion separating these tw o regim es see also section V III.
${ }^{42}$ H B. B raun and H N. Bertram, J. A ppl. Phys. 75, 4609 (1994).
${ }^{43}$ E.C. Stoner and E P. W ohlfarth, P hilos. Trans. R oy. Soc. London A 240, 599 (1948).
${ }^{44}$ M . Lederm an, R. O 'B arr and S. Schultz, to be published in J. Appl. Phys.
${ }^{45}$ H B. Braun and O. B rodbeck, Phys. Rev. Lett. 70, 3335 (1993).

FIG.1. Various anisotropy con gurations axes that can be described by the energy density 2.5). The sam ple cross sectional areas are assum ed to be su ciently sm all such that transversal variations in the $m$ agnetization are suppressed.

FIG.2. The spatial variation of the nucleus is show $n$ for i) elds close to the anisotropy eld and ii) sm all elds. In these pictures, them agnetic chain is taken along the easy-axis. H ow ever, the m odel 2.5) equivalently applies to all situations show $n$ in $F$ ig 1 .

FIG. 3. The reduced prefactor in the overdam ped lim it is show $n$ as a function of the param eter $R$ for di erent values of the hard-axis an isotropy. The lines $(-\quad-)$ and $(---)$ are the asym ptotic form ulas 5.5) and 5.3) respectively.

FIG.4. The decay frequency of the nucleus is shown for di erent values of $R$ and. The dots are results of a num erical solution of 3.2) and the solid line is the approxim ation formula 62).

F IG . 5. N um erical results for the reduced prefactor 4.58) for $m$ oderate dam ping as a function of $R$. The dashed lines represent the asym ptotic form ula 6.7).

FIG.6. The total nucleation rate is shown as a function of the reduced extemal eld for various particle diam eters. The m aterial param eters are chosen as in Sec. V III. The dashed curves indicate the results of the N eel B row n theory. The particle aspect ratio is assum ed to be 15:1.

TABLE I. Summ ary of the results for the prefactor ( 1.58 in the $m$ oderately dam ped lim it for i) large e ective hard-axis anisotropy $Q^{1} \quad 1,(=\operatorname{coth} R)$, and ii) $s m$ all elds $R \quad 1\left(h=\operatorname{sech}^{2} R\right) . N$ ote that the underlying dim ensionless units are given by 2.4).

|  | $=L^{p} \frac{\text { A }}{}$ | $\xrightarrow[+]{+}$ |  |
| :---: | :---: | :---: | :---: |
| i) $Q^{1}{ }^{2} 1^{\text {a }}$ | $\frac{4+}{3=2} \tanh ^{3=2} R \sinh R$ | $\mathrm{q} \frac{\left.\mathrm{L}^{2} \mathrm{Q}^{1}+\mathrm{E}_{0}^{s^{\prime}}\right]+}{}$ | $\mathrm{E}_{0}^{\mathrm{s}^{\prime} \mathrm{b}}$ |
|  |  | $+\begin{array}{llll}\overline{2}^{2} Q^{2} & \left.2 Q^{1} \mathrm{E}_{0}^{\mathrm{s}^{\prime}}\right] \quad \mathrm{Q}^{1} \mathrm{E}_{0}^{\mathrm{s}^{\prime}}\end{array}$ |  |
| $\mathrm{Q}^{1}{ }^{2} \quad 11^{\text {a }, R} \mathrm{R}$ |  | (6.2) ${ }^{\text {c }}$ | $3 R^{2}$6.5) |
|  | $\begin{array}{r}\frac{4.3}{3=2} \\ \hline\end{array}$ | $32^{1} \mathrm{R}$ (6.9) |  |
|  | $\left.\begin{array}{l}\frac{12}{3=2}\end{array}+{ }^{1} \begin{array}{r}\text { R } \\ \\ \\ \\ 6.11\end{array}\right)$ | $\begin{array}{lll}3+{ }^{1} \mathrm{R}^{2} & \\ & 6.9)\end{array}$ |  |
| ii) R | $\frac{4+}{3=2} \tanh ^{3=2} \mathrm{R} \sinh \mathrm{R}$ | $\begin{aligned} & \hline \hline \\ & \left.+\frac{\left.L^{2} Q^{1}+E_{0}^{s^{\prime}}\right]+}{\overline{2}^{2} Q^{2}} 2 Q^{1} E_{0}^{s^{\prime}}\right] \\ & Q^{1} E_{0}^{s^{\prime}} \end{aligned}$ | $\begin{gather*} 8 \mathrm{e}^{2 \mathrm{R}}  \tag{6.2}\\ 42 \mathrm{a} \text { ) } \end{gather*}$ |
|  | $\begin{equation*} \left.p \bar{Q}+{ }^{p} \overline{1+Q}\right\}^{2} \tag{6.7} \end{equation*}$ |  |  |
| $\begin{aligned} & \mathrm{R} \\ & \mathrm{P} \\ & \mathrm{Q} e^{\mathrm{R}}=1^{\mathrm{e}} \end{aligned}$ | $\frac{16}{{ }^{\frac{1}{\bar{z}^{3}}}} \frac{( }{Q}+\mathrm{p} \frac{\left.{ }^{1}\right) \mathrm{e}^{\mathrm{R}}}{1+Q]^{2}}$ | $8\left(+{ }^{1}\right) e^{2 R}$ |  |

[^0]
[^0]:    ${ }^{a}$ In this $\lim$ it, $\operatorname{detH}^{\mathrm{m}} \mathrm{p}=\operatorname{detH}^{\mathrm{sp}}=1$, cf. (4.31)
    ${ }^{\mathrm{b}}$ has to be evaluated num erically
    ${ }^{c} C$ om pared to 6.2.), sm all term $s$ of the order $O\left(\left(Q \mathrm{E}_{0}^{\mathrm{s}^{\prime}}\right)^{2}\right)$ have been dropped.
    ${ }^{\text {d typically realized in experim ents }}$
    ${ }^{\mathrm{e}}$ For ! 1 , these results m erge into 5.5), 5.3) obtained in the overdam ped lim it.

